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  Ispitan je mehanizam visoko temperaturskih faznih transformacija 
cezijum (Cs) izmenjenih zeolita tipa LTA i klinoptilolita (CLI). Analizirane su 
osobine dobijenih faza u pogledu termalne stabilnosti i otpornosti na luţenje 
jona cezijuma. Rezultati pokazuju da su dobijene stabilne kristalne 
alumosilikatne strukture polucita (CsAlSi2O6) i faze CAS (CsAlSi5O12) koje 
mogu biti matrice za imobilizaciju Cs jona. 
Višestrukom jonskom izmenom zeolita LTA i klinoptilolita (CLI) iz 
leţišta Novaković (Prijedor, Bosna i Hercegovina) jonima Cs dobijeni su uzorci u 
kojima je Cs zamenio 37% jona u zeolitu tipa LTA i 81% jona u klinoptilolitu. 
Stepen kristaliničnosti LTA zeolita se znatno smanjuje nakon jonske izmene, dok 
u slučaju klinoptilolita nije došlo do većih strukturnih promena.  
Termalno indukovane fazne transformacije sintetisanih Cs-izmenjenih 
zeolita (Na/Cs-LTA i Cs-CLI) su praćene metodama: DTA/TG, XRD i IC. 
Mehanizam faznih transformacija je takav da je prvi proces dehidratacija, zatim, 
na višim temperaturama sledi amorfizacija i nakon toga rekristalizacija i 
formiranje novih kristalnih struktura. Proces dehidratacije se različito odvija kod 
obe zeolitne strukture. Kod Na/Cs-LTA, potpuna dehidratacija se završi do 900 
°C, a najveći procenat vode (16%) se gubi u intervalu od 25-300 °C. Cs-CLI ima 
dva odvojena procesa dehidratacije: prvi se odvija u intervalu od 25-500 °C, gde 
se gubi 13% vode, a drugi na znatno višim temperaturama, u intervalu (700-1000 
°C) gde se gubi još 12% vode. Zeolit Na/Cs-LTA na 1000 °C rekristalistališe i 
nastaje mešavina dve faze: polucita (CsAlSi2O6) i sekundarne faze nefelina koja 
je Na-aluminosilikat (Na2AlSiO4). Ove faze su stabilne sve do 1400 °C. U 
slučaju Cs-CLI, do rekristalizacije i stvaranja Cs-aluminosilikatne faze-CAS 
(CsAlSi5O12) dolazi na 1150°C. Ova faza je stabilna sve do 1300 °C, a na 1400 




  U cilju dobijanja kompaktnih uzoraka polucita i CAS faze koji bi 
posedovali zadovoljavajuću kompresionu čvrstoću i nizak procenat luţenja 
cezijuma prahovi Na/Cs-LTA zeolita i Cs-CLI su sinterovani (PLS-pressureless 
sintering) i toplo presovani (TP) na odreĎenim temperaturama. Fazna 
transformacija u kojoj nastaje polucit kod toplo presovanog uzorka Na/Cs-LTA 
zeolita se odvija na 750 °C, što je za 250 °C niţe od temperature na kojoj se ova 
faza formira u praškastom i sinterovanom uzorku. Fazna transformacija u kojoj 
nastaje CAS faza kod toplo presovanog uzorka Cs-CLI se odvija na 900 °C, što 
je, takoĎe, za 250 °C niţe od temperature na kojoj se ova faza formira u 
praškastom i sinterovanom uzorku. Ispitivanja osobina uzoraka dobijenih toplim 
presovanjem su pokazala da je prosečna vrednost kompresione čvrstoće TP-
polucita 50 MPa, relativna gustina 94,9% od teorijske vrednosti i da su pore 
uglavnom izolovane jedna od druge i imaju prosečan prečnik od oko 5 mikrona. 
Prosečna vrednost kompresione čvrstoće TP-CAS je veoma niska i svega iznosi 
16 MPa. Uzorak ima relativnu gustinu 68,9% i visoku poroznost, što je posledica 
sprečene visoko-temperaturske dehidratacije (700-1000 °C) praćene značajnim 
gubitkom vode (12%).   
Ispitani proces luţenja nakon 28 dana iz kompaktnih formi pokazuje da su 





) znatno niţe od brzina kojom Cs jon napušta CAS - 
(CsAlSi5O12) fazu: TP-CAS (15,1872 g/m
2
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The mechanism of high-temperature phase transformation of cesium (Cs) 
exchanged zeolites such as LTA and clinoptilolite (CLI) was investigated. 
Thermal stability of obtained phases and their resistance to Cs ion leaching was 
also analysed. It was shown that the obtained stable, crystalline alumosilicate 
structures of pollucite (CsAlSi2O6) and CAS phase (CsAlSi5O12) can be used as 
matrices for Cs ion immobilisation.  
Cs-exchanged zeolites were obtained after multiple ion exchanges of LTA 
zeolite and clinoptilolite (CLI) from Novaković deposit with cesium. 
Approximately 37% of ions in LTA zeolite and 81% of ions in CLI were replaced 
by Cs ions. After ion exchange, the crystallinity degree of LTA zeolite 
considerably decreased. On the other side, pronounced structural changes of 
clinoptilolite were not observed.  
Thermally induced phase transformations of Cs-exchanged zeolites 
(Na/Cs-LTA and Cs-CLI) were studied by means of DTA/TG, XRD and IC. In 
both zeolites, the first step of transformation mechanism was dehydration which 
was followed by amorphisation at higher temperature. The final steps were 
recrystallization and formation of new crystal structures. The dehydration step 
was quite different for the above mentioned zeolites. In the case of Na/Cs-LTA, 
dehydration was complete at 900 
o
C. The largest loss of water (16%) was 
measured in temperature interval from 25 to 300 
o
C. On the other side, the 
dehydration of Cs-CLI is two-step process. Approximately 13% of water loss was 
measured in 25-500 
o
C temperature range whereas additional water loss of 12% 
was measured at much higher temperature (700-1000 
o
C). When heated to 1000 
o
C, Na/Cs-LTA zeolite underwent recrystallization which was followed by 
formation of two-phase mixture consisting of pollucite (CsAlSi2O6) and 
secondary Na-alumosilicate phase (Na2AlSiO4), also called nepheline. Both 
phases are stable up to 1400 
o
C. On the other side, recrystallization of Cs-CLI 
was followed by formation of Cs-alumosilicate phase, CAS phase, (CsAlSi5O12) 
at 1150 
o
C. This phase is stable up to 1300 
o





  In order to obtain solid samples of pollucite and CAS phase with 
sufficiently high compressive strength and low Cs leaching rate, Na/Cs-LTA 
zeolite and Cs-CLI powders were pressureless sintered, PLS (in the form of 
powder compact) and hot-pressed (HP) at certain temperatures. Pollucite 
formation during hot pressing of Na/Cs-LTA powder took place at 750 
o
C which 
was for 250 
o
C lower than the temperature of pollucite formation during 
pressureless sintering. Formation of CAS phase during hot pressing of Cs-CLI 
was observed at 900 
o
C, which was also for 250 
o
C lower than the temperature of 
CAS phase formation during pressureless sintering. The examination of 
properties of hot-pressed samples showed that the average compressive strength 
of HP-pollucite was 50 MPa, the relative density was 94.9% of theoretical 
density and pores were insulated with average diameter of ~ 5 µm. The average 
compressive strength of HP-CAS was fairly low, only 16 MPa. The relative 
density of 68.9% and high porosity were the consequences of suppressed, high-
temperature dehydration (700 – 1000 oC) which was followed by considerable 
weight loss of water (12%). 
  The 28 days long leaching from sintered as well as hot-pressed samples 
showed that the Cs leaching rates from pollucite (CsAlSi2O6): HP-pollucite 
(2.602 g/m
2
) and PLS-pollucite (3.735 g/m
2
) were considerably lower than those 
measured in CAS- (CsAlSi5O12) phase: HP-CAS (15.1872 g /m
2
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  Kristalne faze u sistemu М2О-Cs2O–Al2O3–SiO2 gde M predstavlja jon 
nekog drugog alkalnog metala nisu još uvek dovoljno proučene. Delimično su 
poznati uslovi u kojim kristališe faza polucita CsAlSi2O6 i CsAlSi5O12 (CAS), ali je 
nedovoljno poznato kakav uticaj imaju joni drugih alkalnih i zemnoalkalnih metala 
na formiranje ovih i drugih faza koje u svojoj strukturi imaju jon cezijuma. 
Ispitivanje ovih sistema pored fundamentalnog značaja čiji je cilj razrešavanje 
mehanizama nastanka različitih aluminosilikatnih faza ima i praktičan značaj jer 
čitav niz ovih faza ima nizakili negativan koeficijent temperaturskog širenja što ih 
čini izuzetno interesantnim za praktičnu primenu kao staklokeramika. Osim toga 
stabilne faze u kojima je cezijum izgraĎivački katjon imaju veliki značaj zbog 
njihove potencijalne primene u skladištenju radioaktivnih izotopa cezijuma gde 
aluminosilikati cezijuma, kao što su faze CsAlSi2O6 (polucit) i CsAlSi5O12 (CAS), 
pokazuju obećavajuće osobine kao potencijalne matrice. Za sada su ispitivani 
različiti procesi sinteze ovih faza primenom sol-gel postupaka ili mešanje prahova 
oksida ili karbonata. Glavni nedostaci korišćenja ovih postupaka za dobijanje 
sloţenih mreţnih struktura se ogleda u tome, da je u njima osnova za dizajniranje 
ţeljene strukture samo stehiometrija polaznog sistema.Osim nabrojanih, kao veoma 
atraktivan postupak za ovu primenu ispituje se proces u kome se cezijum jonskom 
izmenom inkorporira u strukturu različitih zeolita, a zatim se nastali cezijum 
izmenjeni zeolit prevodi visokotemperaturskom faznom transformacijom u stabilne 
aluminosilikatne faze. Pored toga, što bi ovaj postupak potencijalno imao veliki 
značaj do sada je objavljen relativno mali broj radova, a interesovanje za ovaj 
postupak poraslo je nakon najnovijih nuklearnih incidenata.  
  Sinteza stabilnih aluminosilikatnih faza koje sadrţe cezijum ovim načinom, ali 
na niţim temperaturama, dala bi veliki doprinos ovoj oblasti jer bi se omogućila 
akumulacija i imobilizacija radioaktivnog cezijuma u zeolitskoj strukturi i na taj način  
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umanjio problem isparljivosti cezijuma, kao i njegovo trajno skladištenje u visoko 
stabilnoj rešetki mreţnih aluminosilikata.  
 
1.2. Ciljevi rada 
 
  Polazeći od prethodnih premisa ciljevi ovog rada bili su: 
 
- ispitivanje mehanizma termalno indukovanih faznih tranformacija 
cezijum-izmenjenih zeolita sa različitim odnosom Si/Al (klinoptinolit  i 
LTA zeolit) 
- definisanje uslova pri kojima dolazi do formiranja stabilnih 
aluminosilikatnih faza koje u svojoj strukturi sadrţe cezijum (Cs)  
- definisanje osobina dobijenih faza u pogledu termalne stabilnosti i 
otpornosti na luţenje jona cezijuma  
- ispitivanje mogućnosti da se dobijene faze svrstaju u potencijalne 
materijale pogodne za skladištenje radioaktivnog cezijuma : 
 a) ispitivanje uticaja sinterovanja bez primene pritiska i primene toplog 
presovanja na sintezu čvrstih uzoraka stabilnih cezijum-aluminosilikata 
adekvatne čvrstoće i niskog stepena luţenja cezijuma. 
 b) definisanje uslova pri kojima je moguće postići smanjenje temperature 
fazne trasformacije cezijum-izmenjenih zeolita primenom toplog 
presovanja što je od velike vaţnosti za potencijalnu primenu ovih 














2. TEORIJSKI DEO 
 
2.1. Zeoliti: struktura, osobine, tipovi 
  Zeoliti predstavljaju najveću grupu kristalnih aluminosilikata sa 
povezanom umreţenom strukturom. Mreţa im je sačinjena od SiO4 i AlO4 
tetraedara koji meĎusobno dele svoje kiseonikove atome. Ovi tetraedri se često u 
skraćenoj oznaci prikazuju kao T-tetraedri i prema kristalohemijskim i 
strukturnim klasifikacijama predstavljaju primarnu izgraĎivačku jedinicu 
aluminosilikatnih zeolita [1]. 
 
 
Slika 1. Šematski prikaz vezivanja osnovnih gradivnih jedinica u strukturi zeolita. 
  Tetraedri se dalje povezuju preko kiseonikovih atoma u sekundarne 
izgraĎivačke jedinice (SBU – Secondary Building Units) ili u veće poliedre, 
čijim se povezivanjem moţe potpuno opisati struktura zeolitske mreţe. U 
strukturama zeolita, do 2007.godine prepoznato je 23 SBU‐jedinica koje su 







Slika 2. Sekundarne gradivne jedinice (SBU) (tačka predstavlja T‐atom (T = Si, 
Al); atomi kiseonika leţe na pravoj koja povezuje dva T‐atoma i nisu prikazani 
zbog preglednosti slike). Broj u zagradi predstavlja učestalost pojavljivanja SBU 






SBU su konačne jedinice koje nisu hiralne, što znači da je samo jedna vrsta SBU 
potrebna da se sastavi trodimenzionalna mreţa. Sastoje se od najviše 16 
tetraedarski povezanih atoma preko atoma kiseonika pri čemu dolazi do 
obrazovanja:  
1) jednostrukih prstenova sa 3, 4, 6, 8 ili 12 TO4‐tetraedara koji se označavaju 
skraćenicama poput S4R ‐ prsten izgraĎen od 4 tetraedra (engl. Single 4 ring, 
S4R); 
2) dvostrukih prstenova gde svaki moţe da sadrţi po 4, 6 ili 8 TO 4‐jedinica; 
označeni su sa D4R ‐ dvostruki 4‐člani prsten (engl. double 4 ring, D4R), ili  
3) jedinica kompleksne graĎe. Na primer, gradivna jedinica „4 ‐4‐1” je 
sastavljena od dvostrukog 4-članog prstena gde oba prstena ostvaruju vezu sa 
zajedničkim spoljašnjim TO4 tetraedrom. 
Povezivanjem sekundarnih izgraĎivačkih jedinica preko atoma kiseonika nastaje 
skelet zeolita koga čine kavezi, pore, šupljine i kanali.  
  Radi lakšeg analiziranja i jednostavnijeg opisa strukture zeolita koriste se 
i komponente periodičnih izgraĎivačkih jedinica (PerBu - Periodic Building 
Units). Periodične izgraĎivačke jedinice se dobijaju iz manjih jedinica sa 
ograničenim brojem T atoma, translacijom i rotacijom tih manjih jedinica.  
Postoje beskonačne PerBU, kao jednostruki i višestruki lanci, tube, slojevi, kao  i 
konačne PerBU kao jednostruki/dvostruki 4  - člani prstenovi, jednostruki/ 
dvostruki 6 - člani prstenovi i kavezi [1, 2]. 
  Zeolitske pore se sastoje iz 6-, 8-, 10-, 12- i 14 – očlanih kiseonikovih 
sistema prstenova na taj način formirajući strukture u obliku tuba i pore koje 
presecaju jedna drugu. Kanali zeolita su ograničeni porama. Efektivna širina 
pora (slobodni dijametri kanala) predstavlja minimalno i maksimalno rastojanje 
izmeĎu kiseonikovih atoma u kanalima. Šupljine su konačne poliedarske pore 
koje imaju najmanje jednu površinu definisanu prstenom dovoljno velikim da 
mogu da uĎu gostujući molekuli i/ ili atomi.  
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  U kanalima i šupljinama zeolita smešteni su i molekuli vode.  Njihova 
količina i poloţaj zavise od strukture zeolita (veličine i oblika šupljina i kanala) 
kao i od broja i prirode katjona u strukturi. Ova voda, koju zbog specifičnog 
ponašanja zeolita pri hidrataciji i dehidrataciji često nazivaju zeolitska voda, 
moţe zauzimati i do 50% ukupne zapremine. Ako ne dolazi do značajne promene 
dimenzija elementarne ćelije pri dehidrataciji, ovaj prostor ostaje slobodan za 
druge molekule koji mogu biti adsorbovani.  
  Zeoliti mogu biti prirodni i sintetički. Okarakterisano je negde oko 40 
prirodnih zeolita dok je broj sintetičkih zeolita znatno već i i iznosi oko 160 
sintetičkih zeolita od čega se 17 proizvodi i ima praktičnu primenu. Opšta 
formula zeolita je Mx/n[(AlO2)x(SiO2)y] • mH2O pri čemu je negativno 
naelektrisan skelet aluminosilikata neutralisan sa katjonom M valence n, a odnos 






2+, reĎe Ba2+ ili Sr2+; m predstavlja sadrţaj vode u 
šupljinama rešetke. Molski odnos Si/Al u rešetki varira, ali je uvek ≥1. Ovo 
znači da se u aluminosilikatnoj mreţi nikada ne obrazuju Al‐O‐Al veze, odnosno 
vaţi Lovenštajnovo pravilo [3].Većina fizičko-hemijskih parametara zeolita 
zavisi od sadrţaja aluminijuma u zeolitu. Atomi aluminijuma ne moraju biti 
uniformno rasporeĎeni u strukturi zeolita već mogu biti locirani u pojedinim 
regionima. Na osnovu vrednosti molskog odnosa Si/Al zeoliti se mogu podeliti u 
četiri grupe:  
a) zeoliti sa malim sadrţajem silicijum-dioksida: SiO2/Al2O3< 4 
b) zeoliti sa srednjim sadrţajem silicijum-dioksida: 4<SiO2/Al2O3 < 20 
c) zeoliti sa visokim sadrţajem silicijum-dioksida: 20 <  SiO2/Al2O3< 200 
d) i zeoliti u kojima je aluminijum prisutan samo u tragovima tzv.zeosili  
  Zeolitska mreţa je negativno naelektrisana. Elektroneutralnost se postiţe 
prisustvom katjona alkalnih i/ili zemnoalkalnih metala koji se smeštaju  u kanale 
i šupljine otvorene aluminosilikatne mreţe. Ovi katjoni se lako mogu izmenjivati jer 
su, usled slabih elektrostatičkih interakcija sa aluminosilikatnom rešetkom, veoma 
pokretljivi što zeolitima daje svojstvo jono‐izmenjivača. Poloţaj razmenjivih katjona  u  
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mineralu zeolita moţe biti različit u zavisnosti od strukture zeolita i samog 
katjona. Katjoni mogu biti koordinaciono povezani: samo sa površinskim O2- 
jonima; sa površinskim O2- jonima sa dve suprotne strane, kao i okruţeni 
molekulima vode; sa O
2-
 jonima sa jedne strane i okruţeni molekulima vode, ili 
pak mogu biti potpuno okruţeni molekulima vode.  
 
2.1.1. Jono-izmenjivačko svojstvo zeolita 











gde m označava naelektrisanje katjona M koji se nalazi u rastvoru, a n 
naelektrisanje pokretljivog katjona N u zeolitu. Zeoliti, sa različitim molskim 
odnosima Si/Al, pokazuju različite afinitete prema katjonima u rastvoru. Tako, 
zeoliti sa malim molskim odnosom Si/Al pokazuju sklonost ka manjim, lako 
pokretljivim i u većoj meri hidratisanim katjonima poput Li+ ili Na+,  dok zeoliti 
sa velikim sadrţajem silicijuma pokazuju veći afinitet prema jonima koji imaju 
manji hidratacioni omotač, kao što su Cs+, Rb+ ili K+. U slučaju prirodnog 
klinoptilolita, koji je u grupi zeolita sa umerenim sadrţajem silicijuma, utvrĎeno 
je da klinoptilolit ima veći afinitet prema Cs+‐jonu (sa prečnikom 0,17 nm) u 
odnosu na manji Li
+
 i Be
2+‐jon (0,06 i 0,03 nm, redom). Ovo je objašnjeno 
činjenicom da hidratisani Cs+‐jon ima manji prečnik (0,33 nm) u odnosu na 
hidratisane Li
+‐ i Be2+‐jone (0,38 i 0,46 nm, redom) [4]. 
  Pokazano je  da se jonska izmena u većini slučajeva odigrava u dva 
koraka pri čemu je   prvi brţi od drugog. U prvom koraku dolazi do zamene 
lako dostupnih  katjona na površini zeolita, zbog čega veličina čestica 
zeolita utiče na proces jonske izmene. Čestice manjih dimenzija  obezbeĎuju 
bolji kontakt čvrste i tečne faze, ali isto tako i veći broj lako dostupnih 
katjonskih mesta. Za razliku od prvog koraka, u drugom, joni iz rastvora 
difuzijom prolaze kroz kanale i šupljine zeolitske rešetke, dolazi do izmene  
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jona, a sama difuzija usporava proces jonske izmene [5]. S tim u vezi, na 
mehanizam i brzinu jonske izmene značajan uticaj imaju kristalografski poloţaji  
katjona u aluminosilikatnoj rešetki.  
 
2.1.2. Zeolit strukturnog tipa LTA (Linde tip A) 
  Ovaj zeolit pripada grupi sintetičkih zeolita koji posedujekubičnu 
simetriju,sa prostornom grupom Fm-3c. Jedinična ćelija sadrţi 192 tetredra i ima 
parametar a = 24,61 Å [1, 2]. Opšta formula Na-LTA zeolita je 
[(Na)12(H2O)27]8[Al12Si12 O48]8  a ako je reč o Na,Ca-LTA onda opšta formula 
izgleda ovako [(Ca,Na)6(H2O)27]8[Al12Si12O48]8.  
 
Struktura LTA zeolita 
  LTA mreţna struktura je sastavljena od  8-članih (8TO4), 6-članih (6TO4) i 
4-članih (4TO4) prstenova meĎusobno povezanih tako da formiraju visoko-
simetrične kubooktaedarske kaveze (tzv. sodalitne ili β-kaveze) i karakterističan 
sistem kanala i šupljina. Sodalitni kavezi (periodične izgraĎivačke jedinice) se 
meĎusobno povezuju preko duplih četvoročlanih prstenova (D4R- sekundarna 
izgraĎivačka jedinica) i na taj način formiraju trodimenzionalnu LTA mreţnu 
strukturu (Slika 3a) i 3b)). Povezivanjem osam sodalitnih kaveza nastaje, u 
centru, tzv.α kavez. α kavez je zapravo šupljina čiji prečnik iznosi 11,4 Å. Oni se 
meĎusobno povezuju preko jednostrukih četvoročlanih prstenova (S4R)  i  na taj 












Slika 3. a) Sodalitni kavez koji poseduje 24 T atoma, b) mreţna struktura , c) alfa 
kavez i d) alfa kavezi meĎusobno povezani koji grade kanale [6].  
 
Kanalni sistem LTA zeolita 
  Kanalni sistem je trodimenzionalan, sastavljen od osmočlanih prstenova 
čija efektivna širina pora (slobodni dijametri kanala) iznosi (4,1 x 4,1) Å.  Kroz 
ovaj sistem mogu da difunduju gostujuće molekulske i katjonske vrste. 
 
 




  Jedinična ćelija zeolita tipa LTA ima 24 tetraedara (12 AlO4 i 12 SiO4). 
Samim tim ova ćelija nosi 12 negativnih naelektrisanja koja se kompenzuju 
katjonima.Ukoliko se elektroneutralnost postiţe prisustvom Na+‐ jona dobija se 
tzv. „Na‐oblikˮ zeolita LTA čije su pore sa efektivnim prečnikom od oko 0,4 nm 
(4 Å) pa se zeolit označava kao molekulsko sito 4A. Ako se izvrši jonska izmena 
sa K, Ca ili Cs, dolazi do izmena dimenzija pora. Ukoliko su prisusutni K
+‐joni 
čiji je prečnik veći od Na+‐jona, dimenzije pora se smanjuju na 3Å pa zeolit ima 
oznaku 3A. Prisustvo Cs
+‐jona, čiji je prečnik još veći od prečnika K+, dovodi 
takoĎe do smanjenja dimenzija pora, tako da je ovo molekulsko sito označeno 
kao zeolit 2A. Joni Ca
2+,  iako poseduju veći prečnik od jona alkalnih metala, 
prilikom jonske izmene, povećavaju osmočlani prsten LTA zeolita na 5Å pa se 
ovo molekulsko sito označava kao 5A zeolit. Proširenje pora se javlja zbog toga 
što je Ca jon dvovalentan pa tako svaka jedinična ćelija 4 Na jona menja sa 2 Ca 





  Klinoptilolit je jedan od najrasprostranjenijih prirodnih zeolita sa opštom 
formulom: (Na,K,Ca)4Al6Si30O72·24H2O. Pripada hejlanditskoj grupi prirodnih 
zeolita.U prirodnim uslovima serija klinoptilolit-hejlandit se najčešće obrazuje u 
sedimentnim stenama vulkanskog porekla. 
  Klinoptilolit je izostrukturan sa hejlanditom a razlikuju se po molskom 
odnosu Si/Al što utiče na njihovu termičku stabilnost. Zagrevanjem hejlandita (molski 
odnos Si/Al = 2,5‐3,7) na 350 – 450 °C dolazi do narušavanja kristaliničnosti, dok je 
klinoptilolit (molski odnos Si/Al = 4,0‐5,3) termički stabilan do 800 °C [10, 11]. 
Natrijum i kalijum su glavni izmenjivi joni u strukturi ova dva tipa zeolita uz često 




 manjim odnosom Si/Al, dok je prisustvo kalijuma veće kod oblika sa većim 
odnosom Si/Al. Klinoptilolit je monokliničan (α = γ = 90o, β = 116,42o) sa 
sledećim vrednostima parametara jedinične ćelije: a = 17,71Å, b = 17,89Å, c = 
17,43Å. Pripada C2/m prostornoj grupi [12]. 
Struktura klinoptilolita  
  Klinoptilolit poseduje hejlanditsku mreţnu strukturu (HEU). Ova mreţna 
struktura je sastavljena od sledećih prstenova: 10-očlanih (10TO4), 8-članih 
(8TO4), 5-članih (5TO4) i 4-članih (4TO4) koji se meĎusobno povezuju i grade 
sekundarne i periodične izgraĎivačke jedinice. Klinoptilolit je sastavljen od 
duplog četvoročlanog prstena D4R (sekundarne izgraĎivačke gradivne jedinice) 
sa dodatnim vezujućim atomom T (4-4-1 jedinica). Ove jedinice se meĎusobno 
povezuju gradeći lance paralelne z-osi (Slika. 5a). Na taj način se grade 
periodične izgraĎivačke jedinice koje se dalje povezuju obrazujući slojeve. 
Slojevi su povezani jednostrukim T-T vezama i na taj način se formiraju 8-člani i 
10-člani prstenovi (Slika 5b).  
 
 
Slika 5. a) GraĎenje lanaca klinoptilolita paralelnih z-osi koji predstavljaju 
periodične izgraĎivačke jedinice i b) povezivanje periodičnih izgraĎivačkih 







Slika 6. Struktura klinoptilolita [6]. 
 
Kanalni sistem klinoptilolita  
  Klinoptilolit poseduje tri vrste kanala koja se seku pa je kanalni sistem 
dvodimenzionalan. 
 
Slika 7. a) 10-člani prsten paralelan sa z osom (5,5 x 3,1) Å b) 8-člani prsten 
paralelan sa z osom (4.1 x 4.1) Å c) 8-člani prsten paralelan sa x osom (3,4 x 
2,8) Å [6]. 
  Kanali A (sa efektivnom širinom pora (5,5 x 3,1) Å) i B (sa efektivnom 
širinom pora (4,1 x 4,1) Å) pruţaju se duţ z‐ose, dok se kanal C (sa efektivnom 




2.1.4. Cezijum aluminosilikat – CAS faza 
  U potrazi za odgovarajućom kristalnom fazom potencijalno korisnom za 
fiksiranje i skladištenje radioaktivnih izotopa Cs sintetisan je i mikroporozan 
cezijum aluminosilikat sa opštom formulom CsAlSi5O12. Ova faza je prvobitno 
otkrivena kao sporedni proizvod prilikom sinteze feldspata [13]. Uslove sinteze i 
kristalnu strukturu CsAlSi5O12 prvi je definisao Araki (1980) [14].Kasnije je ova 
struktura opisana kao CAS tetraedarska mreţa [15]. Cezijum aluminosilikatna 
kristalna struktura CAS je ortorombična. Poseduje Ama2 prostornu grupu i 
sledeće vrednosti parametara jedinične ćelije: a = 16,76 Å, b = 13,828 Å, c = 
5,021 Å. 
Struktura CAS faze 
  Kompletnu strukturu čine sledeći prstenovi: 8-člani (8TO4), 6-člani 
(6TO4), 5-člani (5TO4). CAS je izgraĎen od cik-cak lanca duţ x-ose(Slika 8 a)). 
Rastojanje koje se ponavlja duţ ovog lanca je oko 5,2 Å. Ponavlja se jedinica 
koja se sastoji od 2T atoma. Tri cik-cak lanca grade konačnu izgraĎivačku 
jedinicu.Ove jedinice se meĎusobno povezuju gradeći periodične izgraĎivačke 
jedinice (Slika 8 b).Susedne periodične izgraĎivačke jedinice se povezuju u 
slojeve duţ y-ose preko petočlanih prstenova i na taj način grade osmočlane 
kanale (8TO4) koji su prikazani na slici 9.  
 
Slika 8. Gradivne jedinice CAS: a) Konačna izgraĎivačka jedinica od tri cik -cak 





Slika 9. Povezivanje susednih periodičnih izgraĎivačkih jedinica u slojeve duţ 
y-ose preko petočlanih prstenova i graĎenje osmočlanih kanala  [6]. 
 
Kanalni sistem CAS faze  
 
  Kanalni sistem je jednodimenzionalan i sastavljen je od 8-članih 
prstenova duţ z ose. Efektivna širina ovih pora je oko (4,7 x 2,4) Å ( slika 10.).  
Prečnik Cs jona je 3,34 Å, tako da, nakon što se CAS faza formira, Cs koji je 
uhvaćen u mreţu, tj.kanale, ne moţe da izaĎe.  
 
 










  Polucit je zeolitni mineral, mada je uobičajeno definisan kao feldspatoid, 
sa opštom formulom CsAlSi2O6. U prirodi se pojavljuje uglavnom u granitnim 
pegmatitima bogatim litijumom i cezijumom. Izostrukturan je sa analcimom i 
pripada analcimskoj zeolitnoj familiji. Na sobnoj temperaturi, uobičajena 
simetrija polucita je kubična,  sa prostornom grupom Ia3d. Prosečan parametar 
jedinične ćelije iznosi a ~ 13,68 Å. Atomi cezijuma su koordinisani sa 12 O 
atoma koji pripadaju tetraedarskoj mreţi (6 Cs-O ~ 3,39 Å and 6 Cs-O ~ 3,56 Å) 
[16]. Imajući u vidu dapolucit ima visoku tačku topljenja (> 1900 oC) [17] i 
nizak koeficijent termalne ekspanzije [18], moţe se smatrati potencijalnim 
kandidatom za primenu u uslovima gde su materijali izloţeni visokoj temperaturi 
i velikom termo-šoku.  
  Polucit ima mogućnost da,i uronjen u vodenu fazu, zadrţi Cs u svojoj strukturi 
čak i pod hidrotermalnim uslovima, bolje nego nekoliko drugih minerala bogatim 
cezijumom. Ovo ponašanje je izazvano topološkom konfiguracijom cezijumskog 
poliedra i njegovog okolnog vezivanja, i visokom fleksibilošću analcimskog tipa 




odnosu na druge sintetičke mikroporozne i mezoporozne Cs-aluminosilikate. U 
tom svetlu, polucit se moţe smatrati funkcionalnim materijalom koji je 
potencijalno koristan za fiksaciju i depoziciju radioaktivnih izotopa Cs [22-27]. 
Struktura polucita – analcimska mrežna struktura (ANA) 
  Polucit poseduje analcimsku mreţnu strukturu koja je sastavljena od 
sledećih prstenova: 8-članih (8TO4), 6-članih (6TO4) i 4-članih (4TO4), 
povezanih u lance (periodične izgraĎivačke jedinice) koji formiraju šupljine i 
kanale [6].  
  ANA struktura nastaje kada se dva šestočlana prstena, paralelna sa osom  
x, i koja se meĎusobno odnose kao objekat i lik u ogledalu, poveţu preko 




Slika 12. Povezivanje dva šestočlana prstena u lanac duţ y ose preko 
iskrivljenog četvoročlanog prstena [6].  
Lanci, prikazani na slici 12., se povezuju duţ z-ose preko iskrivljenih 




Slika 13. Periodične izgraĎivačke jedinice su povezane i grade xy slojeve (levo) 
i yz slojeve (desno) preko četvoročlanih zakrivljenih prstenova [6]. 
Kanalni sistem polucita  
  Šupljine u ANA, koje se sastoje od tri zakrivljena osmočlana i dva 
šestočlana prstena, povezuju se u „duple” šuljine koje zatim formiraju kanale 
nepravilnog oblika, slika 14.  
 
 




Kanalni sistem je trodimenzionalan, sastavljen od zakrivljenih osmočlanih 
prstenova čija efektivna širina pora (slobodni dijametri kanala) iznosi 4,2 x 1,6 
Å. Dijametar Cs jona je 3,34 Å, tako da, nakon što se polucit formira, Cs koji je 
uhvaćen u mreţu, tj. kanale, ne moţe da izaĎe lako u spoljašnju sredinu.  
 
 









2.2. Problemi skladištenja radioaktivnih izotopa cezijuma  






Cs) su glavne komponente 
srednje aktivnog otpada iz nuklearnih elektrana i stoga predstavljaju ogroman 
problem za ţivotnu sredinu. Radi sprečavanja radioaktivnog cezijuma da uĎe u 
zemljište i podzemne vode od velike je vaţnosti bezbedno sklad ištenje istog. U 
suprotnom, cezijum vrlo lako moţe dospeti u biosistem tako što ga biljke mogu 
zameniti sa kalijumom. Zbog svega navedenog, danas postoji velika potreba za 
pronalaţenjem najboljeg načina i materijala za trajnu imobilizaciju.  
  Tečni otpad koji sadrţi Cs obično se tretira sa materijalima poput cementa, 
smola, glina i zeolita. Različite tehnike za imobilizaciju kao što su adsorpcija, 
jonska izmena i termička obrada obično se koriste da se radionuklidi koncentrišu u 
malim zapreminama čvrstog otpada [28, 29]. Cementni materijali su široko 
korišćeni za imobilizaciju niskog i srednjeg radioaktivnog otpada [30-33]. MeĎutim, 
dokazano je da cementni materijali imaju nekoliko nedostataka kao što su: visoka 
poroznost, slaba adsorbtivnost [34] i visoka difuzivnost cezijuma, posebno u 
hidratisanom cementu [35]. Upotreba organskih smola kao izmenjivača ispostavila 
se neodgovarajućom zbog slabe radijacione i termalne stabilnosti [36]. Jedan od 
najefikasnijih metoda za imobilizaciju radioaktivnih elemenata je zasnovan na 
jonskoj izmeni zeolita [23, 37, 38]. Zeoliti, otporni na radioaktivno zračenje [39] i 
sa visokim afinitetom za katjonom cezijuma [22], potencijalno predstavljaju 
pogodan materijal za imobilizaciju radioaktivnog cezijuma. Problem nastaje kada je 
potrebno ovakav materijal trajno skladištiti. Nakon jonske izmene neophodno je 
blokirati Cs jone u strukturi zeolita u cilju sprečavanja luţenja Cs kada zeolit doĎe u 
dodir sa vodom. Različiti pristupi su primenjeni kako bi se izbeglo curenje (luţenje) 
Cs. Na primer, zeolit koji je napunjen radioaktivnim izotopima cezijuma moţe biti 
inkorporisan u borosilikatno staklo [38] koje u odreĎenoj meri fizički sprečava 
kontakt vode i zeolita. TakoĎe je bezuspešno pokušano da se Cs zadrţi u porama 
zeolita njihovom blokadom pomoću barijuma [40, 41]. Jedan od načina da se 
onemogući luţenje radioizotopa cezijuma iz zeolita je formiranje stabilnih                
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jedinjenja u kojima je Cs čvrsto vezan.  Poznato je da kada se zeoliti izloţe 
visokim temperaturama dolazi do njihove fazne transformacije [42, 43].  
  Glavno interesovanje za kristalne faze u sistemu MO-Cs2O–Al2O3–SiO2 
potiče iz njihove moguće primene za imobilizaciju radioaktivnih izotopa 
cezijuma. Do sada su poznate sledeće kristalne cezijum aluminosilikatne faze: 
CsAlSi5O12 (CAS-cezijum aluminosilikat) [44], polucit CsAlSi2O6 (ANA-
analcim) [45], Cs0.35Al0.35Si2.65O6 (BIK- bikitait) [46], i CsAlSiO4 (ABW-Li-A 
(Barrer and White)) [47, 48]. Klasičan način sintezeovih faza podrazumeva 
kristalizaciju sol-gel postupkom ili mešanje prahova oksida ili karbonata što 
kada je reč o imobilizaciji radioaktivnog cezijuma  koji sa stanovišta 
eksperimentalnog rada i u pogledu rezultata nije pouzdan proces. Potpuno 
drugačiji postupak, jeste postupak termalno indukovanih faznih transformacija 
zeolita koji se zasniva na dobroj jonskoj izmenjivosti vanmreţnih katjona u 
zeolitima i temperaturnom tretmanu izmenjenih zeolita [42, 49, 50]. Topologija 
strukture se menja prilikom termalnog tretmana što konceptualno razdvaja ovaj 
način sinteze aluminosilikatnih materijala od prethodnih postupaka i čini ga 
pogodnim za primenu u imobilizaciji radioaktivnih izotopa cezijuma.  
  Mimura i Kanno su još 1980. godine proučavali termalne transformacije 
cezijumski izmenjenih zeolita Cs-A, Cs-X, Cs-Y, CsSM, CsNM, CsCP (SM – 
sintetički mordenit, NM-prirodni mordenit, CP-klinoptilolit). Dobili su sledeće 
rezultate: CsA rekristališe u nefelin i polucit iznad temperature od 1000°C, CsX 
i CsY se menjaju u polucit samo iznad 1000 °C i 1100 °C, respektivno. Uzorci 
CsSM, CsNM i CsCP ne rekristališu već postaju amorfni [23]. Dimitrijević i 
saradnici [51] su ispitivali termalnu transformaciju Cs-X, Cs-Y i Cs-ZK4 zeolita 
i ustanovili da nakon kolapsa struktura iznad 1000 
oC svi rekristališu u polucit. 
Zeolit Cs-mordenit na 1300 °C rekristališe u rombičnu fazu sastava CsAlSi5O12 
dok Cs-A zeolit na 960 °C rekristališe u smešu dve različite polimorfne 
modifikacije CsAlSiO4-ABW i CsAlSiO4-ANA. Bosch sa saradnicima [39] je 
ispitivao sposobnost imobilizacije Cs jona jonskom izmenom dva zeolitska tufa i 
uporeĎivao njihove termalne transformacije. Nakon termalnog tretmana na 1000 
°C zaključeno je da  se cezijum zadrţava  kroz različite mehanizme: napuljski  
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ţuti tuf (filipsit, analcim, šabazit) se transformiše u polucit, a Agua Prieta tuf 
(erionit, šabazit, klinoptilolit) formira amorfnu fazu. Pokazalo se da je napuljski 
ţuti tuf mnogo efikasniji cezijum-enkapsulator ako je tretiran na 1000 °C nego 
Agua Prieta tuf. Cappelletti sa saradnicima [52] je 2011. godine ispitivao 
termalne transformacije sledećih prirodnih zeolita klinoptilolit, filipsit i šabazit. 
Oni su jonski izmenjene prirodne zeolite termalno tretirali i pratili fazne 
promene sve u cilju pronalaţenja najboljih uslova za imobilizaciju Cs -jona 
tj.formiranje stabilnih Cs-aluminosilikatnih faza kao što je polucit. Uzorci su 
zagrevani u temperaturskom intervalu od 800-1100 °C. Cs-filipsit i Cs-šabazit su 
se fazno transformisali u polucitnu fazu na 1000 °C i 900 °C, respektivno. 
Brundu i Cerri [53] su ispitivali protokol da proizvedu CsAlSi5O12 fazu iz Cs 
izmenjenog klinoptilolita. Zaključili su da se fazna rekristalizacija Cs -
klinoptilolita dešava na temperaturama iznad 1150°C i sa tim su uspešno 
sintetisali CAS. Daljim pregledom literature koja se odnosi na termalnu 
stabilnost i postojanost Cs-aluminosilikatnih faza moţe se zaključiti da su 
najstabilnije faze CsAlSi5O12 (CAS) [46, 54, 55, 56] i polucit CsAlSi2O6 (ANA) 
[20, 22, 25-27]. 
 
 
2.3. Fazne transformacije zeolita primenom temperature i  
pritiska 
2.3.1. Visokotemperaturne termalno indukovane fazne transformacije zeolita 
  Primena visokotemperaturskih faznih transformacija mreţnih struktura, 
kao što su zeoliti, omogućava precizno dizajniranje nastanka novih faza na 
nanometarskom nivou ureĎenosti stehiomet rije i strukture faza. Celokupni 
termalni tretman zeolita i zeolitskih prekursora u osnovi se moţe odvijati u 
nekoliko faza: 
A) Dehidratacija zeolita i povećanje mobilnosti slobodnih vanmreţnih jona  
B) Amorfizacija uzorka 
C) Kristalizacija nove faze 
D) Fazna transformacija 
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2.3.2. Dehidratacija zeolita i povećanje mobilnosti slobodnih vanmrežnih jona 
  Prilikom zagrevanja zeolita prvo dolazi do dehidratacije zeolita i 
povećanja mobilnosti slobodnih vanmreţnih katjona. Ovaj proces ujedno 
predstavlja prvu fazu u termalno indukovanim faznim transformacijama. On 
moţe biti reverzibilan ako se termalni tretman prekine ili odrţava u konstantnom  
temperaturskom reţimu. U ovoj fazi, ako za njom sledi dalji termalni tretman, 
sistem izotvorenog prelazi u sistem koji je na dalje zatvoren. Ovo je faza u 
termalnom tretmanu u kojoj dolazi do promene u koordinaciji vanmreţnog 
katjona, koga sada koordiniraju samo kiseonični joni iz mreţe, a ne i kiseonični 
joni iz molekula vode koja je isparila. To moţe da izazove i distorziju mreţe  
[57]. 
 Prva faza termalno indukovanih faznih transformacija traje sve do trenutka 
kada dolazi do razgradnje T-O veza unutar mreţe i prelaska strukture u amorfno 
stanje. Tada počinje druga faza procesa. 
Smatra se da nekoliko suštinskih hemijskih i strukturnih faktora kontroliše 
termalno ponašanje zeolita utičući na temperature dehidratacije i delimično ili 
potpuno rušenje zeolitske strukture [58 - 60]: 
(1) Si/Al odnos u mreţi 
(2) jonski potencijal i velič ina izmenjivih katjona koji balansiraju naelektrisanje 
mreţe 
(3) koordinacija ogoljenih katjona nakon dehidratacije  
(4) topologija mreţe 
  Već je poznata činjenica da sa porastom Si/Al odnosa u mreţi raste i 
termalna stabilnost zbog toga što je potrebno više energije da se utroši za 
raskidanje Si-O veze u poreĎenju sa Al-O vezom, usled njihove različite duţine 
(d(Al-O) = 1,75 Å; d(Si-O) = 1,62 Å). MeĎutim, za zeolite sa većim Si/Al 
odnosom, usled povećanja hidrofobnosti njihove površine, se očekuju niţe 
temperatura dehidratacije [61]. 
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  Priroda i broj van-mreţnih metalnih katjona (modifikatori mreţe) 
značajno doprinose stabilnosti zeolita [62]. Najpogodniji parametar za procenu 
uticaja van-mreţnih katjona (katjona modifikatora) na termalnu stabilnost 
zeolita, jeste jonski potencijal koji je izraţen odnosom naelektrisanja (Z) i 
radijusa (r) izmenjivih katjona tj. Z/r. Alternativno se mogu uzeti u obzir i 
veličine Z/r2 i Z/r3 [63] koje predstavljaju vrednosti gustine električnog 
naelektrisanja.  
  Vanmreţni katjoni su delimično ili potpuno koordinisani molekulima 
vode. Nakon gubitka vezanih molekula vode prilikom dehidratacije izazvane 
zagrevanjem, van-mreţni katjoni se pomeraju ka mreţnim kiseonikovim 
atomima u cilju formiranja novih veza. Ovaj mehanizam dovodi do lokalnog 
naprezanja teraedarske mreţe što konačno dovodi do raskidanja veza zeolitske 
mreţe, prvenstveno T-O-T mostova. Ogoljeni katjoni menjaju svoj poloţaj zbog 
potrebe za niţom energetskom konfiguracijom u raspoloţivom prostoru [61]. 
  Značajan faktor u stabilnosti svake kristalne strukture predstavlja i 
geometrija kristalne mreţe. Predloţeno je nekoliko karakteristika mreţne 
topologije zeolita koje utiču na termalnu stabilnost [59, 64-68]: gustina i 
fleksibilnost mreţe, T-O-T uglovi, broj tetraedara koji sačinjavaju prsten, 
pravilnost prstenova, prisustvo specifičnih strukturnih podjedinica.   
Osim gore pomenutih faktora, na termalno ponašanje zeolita  moţe uticati takoĎe 
i količina prisutne vode, veličina kristalnog zrna, spoljašnji uslovi što su način 
(kontinualno/diskontinualno) i brzina zagrevanja.Tako da, zbog uticaja svih 
različitih faktora koji čine simultani doprinos, nemoguće je izvesti opšta p ravila 
za predviĎanje termalne stabilnosti zeolita.  
2.3.3. Amorfizacija uzorka 
  Amorfizacija predstavlja drugu fazu procesa termalno indukovanih 
faznih transformacija zeolita. Počinje sa razgradnjom T-O veza i završava se 





nanostrukturnog materijala. Nanostrukturno stanje se moţe definisati 
postojanjem velike slobodne površine, koja je posledica postojanja veoma malih 
kristalita, dimenzija izmeĎu 10 i 100 angstrema [69]. Ovo stanje najčešće nastaje 
pod uticajem a) linijskih defekata ili b) smicanjem ravni u nanočesticama. Velika 
slobodna površina kod nanostrukturnih stanja uslovljava značajne razlike brojnih 
fizičkih i hemijskih osobina u poreĎenju sa kristalnim, amorfnim i staklastim 
stanjima [69].Ova činjenica se moţe objasniti ako se ima u vidu da su 
elektronske strukture u okolini pravaca ivičnih dislokacija i u oblastima smicanja 
drugačije nego unutar kristalne strukture [57]. 
 
 
Slika  17. Ivična dislokacija u teseralnoj elementarnoj ćeliji [57]. 
  Amorfni materijali i stakla se, prilikom temperaturskog tretmana, 
formiraju, samo ako u ispitivanom sistemu postoje bar dve polimorfne 
modifikacije izgraĎene od različitih sekundarnih izgraĎivačkih jedinica (SBU) 
koje uslovljavaju postojanje napona na kontaktu dva topološki različita klastera  
[70]. U kontaktnom delu, čije dimenzije i stepen ureĎenosti zavise kako od 
topologije kristalnih polimorfa tako i od stepena devitrifikacije, difrakcija 
rendgenskih zraka je nekoherentna što ukazuje na postojanje neureĎenog stanja.  
  Za opisivanje struktura stanja sa niskom ureĎenošću (npr. amorfna, staklasta 





sistema koji se ispituju u ovom radu, monomerne jedinice su TO4 tetraedri (SiO4 
i AlO4) koji ujedno predstavljaju primarne izgraĎivačke jedinice.  Povezivanjem 
ovih tetraedara u veće grupe, stvaraju se sekundarne izgraĎivačke jedinice koje 
se daljom polimerizacijom uklapaju u kristalne strukture [71 - 73]. 
 
2.3.4. Kristalizacija nove faze 
 
  Na osnovu vaţećih teorijskih proračuna proizilazi da se kristalizacija 
odigrava redosledom: 
 
Ispitujući proces nukleacije u silikatima ustanovljeno je da se nukleacija odvija 
na taj način što se monomerne ili polimerne jedinice udruţuju u klastere u obliku 
Qo, Q1, Q2, Q3, Q4 (Slika 18.) [71, 72]. Aktivaciona energija za nukleaciju 
direktno je proporcionalna broju razgraĎenih odnosno broju nagraĎenih T -O veza 
u matriksu odnosno klasteru. Pošto je u tetraedarskoj koordinaciji veza Al-O 
slabija nego veza Si-O, veći sadrţaj Al u aluminosilikatu smanjuje aktivacionu 
energiju za odigravanje procesa nukleacije [71]. TakoĎe, ugraĎivanjem grupa Q 
jedinica u nukleuse, u vidu slojeva i lanaca, smanjuje se aktivaciona energija 










Slika 18. Moguća ureĎenja TO4 jedinica u nisko ureĎenim trodimenzionalnim 
mreţama [57]. 
 
U daljim istraţivanjima, ne samo procesa nukleacije u SiO 2 staklu, već i u 
feldspatskom staklu, zaključeno je, da od organizacije primarnih izgraĎivačkih 
jedinica zavisi proces nukleacije i rasta kristala iz amorfnog stanja  [73]. 
 
 
2.3.5. Fazna transformacija 
  Potpuno nova faza koja nastaje je stabilna u odreĎenim termodinamičkim 
uslovima. Pri promeni tih uslova ona se transformiše u novu fazu koja je stabilna u 
novim uslovima. U zavisnosti od hemijskog sastava i uslova u sistemu transformacija 
moţe ići različitim putevima. Nakon kristalizacije novih faza iz zeolitskog prekursora,  
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daljim temperaturnim tretmanom dolazi do promene kako topologije polimorfnih 
modifikacija tako i veličine kristalita, broja dislokacija, mikronaprezanja kao i 
njihovih raspodela. Praćenje ovih vrednosti moţe posredno dati sliku o termalno 
indukovanim promenama koje se dešavaju u ispitivanim uzorcima [74]. 
  Identifikovane su tri vrste sila koje se pojavljuju u toku faznog prelaza  
[75, 76]. Polarizabilnost kiseonikovih jona uzrok je pojave klasičnih 
disperzivnih (Van der Walls) interakcija koje opadaju sa šestim stepenom 
rastojanja. Ove interakcije dovode sistem do njegove najveće gustine dozvoljene 
odbojnim interakcijama kratkog dometa. Visokotemperaturne faze su uvek u 
konfiguraciji minimalne gustine, tako da će fazni prelaz uvek voditi do 
povećanja gustine pa prema tome i smanjenju disperzione energije. Na taj način, 
disperziona energija uvek deluje kao sila koja fazni prelaz vodi od faze visoke 
simetrije u fazu niţe simetrije i veće gustine [61]. 
  Druga sila koja dovodi do faznog prelaza je unutrašnje privlačenje 
kratkog dometa koje katjon u šupljini ispoljava na susedne kiseonikove anjone. 
Ovo unutrašnje privlačenje će uvek teţiti da dovede do kolapsa šupljine oko 
katjona i na taj način prevede strukturu u fazu niţe simetrije.  Treća sila je 
povezana sa teţnjom da Si-O-Si uglovi budu u intervalu 145 – 150° [77]. Npr. u 
kristobalitu, gde uglovi veza u idealnoj strukturi beta-faze iznose 180°, ova sila 
dovodi do prelaza u ureĎenu alfa-fazu sa povoljnijim Si-O-Si uglovima.  
 
2.3.6. Difuzija 
  Svaka transformacija se javlja zbog teţnje sistema da smanji Gibsovu slobodnu 
energiju. Stoga, veća vrednost površinske energije na granici koja nastaje usled veće 
strukturne razlike izmeĎu kristalnih faza, povećava vrednost ukupne energije fazne 
transformacije. U mineralima i neorganskim materijalima rast faza nastalih tokom 
transformacije najčešće je kontrolisan difuzijom. Difuzija kroz čitavu zapreminu 
kristala naziva se zapreminska difuzija. Kristali su najčešće anizotropni, tj. imaju 
različite vrednosti fizičkih parametara u različitim pravcima, što za posledicu ima lakšu  
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difuziju duţ nekih pravaca u kristalu. TakoĎe, difuzija se lakše ostvaruje na 
slobodnim površinama, duţ pravaca pruţanja defekata i na faznim granicama u 
kristalu (Slika 19.) [74]. 
 
 
Slika 19. Tipovi difuzije: površinska, na granici zrna i zapreminska. Pravci 
migracija atoma prikazani su strelicama [74]. 
  Postoje dva objašnjenja procesa difuzije: atomističko i fenomenološko. 
Atomistički pristup proučava puteve difuzije i izvodi kinetičke relacije koje 
opisuju difuziju na osnovu različitih modela kretanja atoma. Sa ovog stanovišta 
vaţi da, ako u toku difuzije atom migrira sa jednogna drugo mesto u strukturi, za 
to mora postojati termodinamički razlog. Migracijom atom sniţava svoju 
energiju, a time i ukupnu energiju sistema.TakoĎe, prilikom migracije dolazi do 
razgradnje hemijskih veza, što zahteva energiju. Povećanjem temperature, 
odnosno kinetičke energije atoma, povećava se mogućnost razgradnje hemijske 
veze nekog atoma i njegove migracije u novi poloţaj, zbog čega brzina difuzije 
znatno zavisi od temperature. Često se eksperimentalno mogu dobiti samo 
usrednjene vrednosti pa se zbog toga primenjuje fenomenološki pristup u kojem 
se eksperimentalno izmereni parametri tj. usrednjene vrednosti povezuju sa 





2.3.7. Osnove sinterovanja u čvrstoj fazi  
  Sinterovanje predstavlja termički tretman tokom koga se čestice praha 
povezuju u čvrstu, koherentnu strukturu. Ovaj proces je praćen eliminacijom 
pora koje se nalaze izmeĎu čestica materijala [78]. Sama suština procesa 
sinterovanja je dobiti što je moguće gušći materijal na što niţoj 
temperaturi.Tokom sinterovanja, stepen adhezije čestica u kontaktu raste  sa 
vremenom, uz sniţavanje površinske energije čestica praha, tako da početni 
slobodno nasuti prah ili mehanički presovani prah  koji je zagrejan na visokoj 
temperaturi prelazi u čvrst uzorak visoke gustine.  
  Na brzinu procesa sinterovanja utiču karakter istike samog materijala i 
uslovi procesiranja. Karakteristike materijala koje utiču na sinterovanje su  
veličina i morfologija čestica,  hemijski i fazni sastav, stepen aglomeracije, itd. S 
druge strane, uslovi procesiranja obuhvataju temperaturu sinterovanja, brzinu 
zagrevanja, vreme i atmosferu sinterovanja, primenu spoljašnjeg pritiska ili 
nekih drugih fizičkih polja [78]. 
  Pokretačka sila zgušnjavanja pri sinterovanju je teţnja sistema ka 
smanjenju ukupne površinske energije, koja je posledica velike specifične 
površine polaznog praha. Iako jepokretačka sila za sve sisteme ista, mehanizmi 
sinterovanja se razlikuju zavisno odprenosa mase. Mogu se podeliti na: 
površinsku i zapreminsku difuziju, isparavanje-kondenzaciju, na difuziju po 
granicama zrna, viskozni i plastični tok. Pored energija kontaktnih površina, 
parametri koji utiču na sinterovanje su i dijametar pora i veličina zrna [78]. 
 
2.3.7.1. Faze procesa sinterovanja 
 
  U početnoj fazi sinterovanja od kontaktnih tačaka nastaju tzv.vratovi na 
račun smanjenja površinske slobodne energije. U ovoj fazi gustina materijala se 
ne menja značajno, a takoĎe ne dolazi ni do rasta zrna u odnosu na početnu 
veličinu čestica [78]. U srednjoj fazi sinterovanja relativna gustina uzorka 





Slika 20. Šematski prikaz mikrostrukturnih promena u toku procesa sinterovanja [78]. 
Karakteriše se simultanim zaobljavanjem pora, zgušnjavanjem materijala i 
rastom zrna. U poslednjoj, završnoj fazi sinterovanja vratovi su već narasli 
toliko, da se pri zgušnjavanju materiala formiraju izolovani cilindri (otvorena 
poroznost) koji daljim odvijanjem procesa prelaze u izolovane sfere (zatvorena 
poroznost) [79]. 
  Proces sinterovanja se moţe pospešiti istovremenom upotrebom pritiska i 
visoke temperature kao što je slučaj kod toplog presovanja (hot pressing – HP), 
toplog izostatskog presovanja (hot isostatic pressing – HIP), sinterovanja u 
električnom luku (sparkplasma sintering – SPS). Kod ovih tehnika potencijal 
sinterovanja se značajno povećava putem mehanizama istezanja, smicanja i 
kompresije graničnih, meĎučestičnih i intergranularnih regiona do kojih dolazi 
usled primene spoljašnjeg pritiska. U slučaju SPS vreme sinterovanja je značajno 
skraćeno usled intenzivnog zagrevanja koje je omogućeno primenom električnog 
polja. Od ove tri tehnike moţe se reći da je toplo presovanje ekonomski 







2.3.7.2. Toplo presovanje 
 
  Toplo presovanje (eng. hot pressing – skraćeno HP) je tehnika koja se 
koristi za postizanje visoke gustine materijala simultanom primenom 
mehaničkog pritiska i temperature [80]. 
  Proces toplog presovanja se obično odvija na temperaturi u opsegu 50 do 
80 % od tačke topljenja materijala uz primenu mehaničkog pritiska od oko 50 
MPa [81]. Osnovni faktori koji utiču na proces toplog presovanja su: veličina 
čestica, temperatura, vreme, atmosfera sinterovanja i pritisak, pri čemu uvek 
treba imati u vidu i njihovu povezanost. 
  Kod tehnike toplog presovanja prah se smešta u kalup, koji je najčešće 
napravljen od grafita. Kalup se smešta u komoru koja se zagreva. Uz pomoć 
pritiskača, takoĎe od grafita, postiţe se i odrţava ţeljena vrednost pritiska. 
Uobičajeno, u procesu toplog presovanja , od samog početka se primenjuje  
umereni pritisak, od 10-20MPa [81]. Nakon dostizanja temperature sinterovanja 
pritisak postiţe svoj maksimum. Primenjeni pritisak se obično zadrţava i u toku 
perioda hlaĎenja.  
  U početnim fazama presovanja prah poseduje prividnu gustinu jer postoji 
veliki udeo praznog prostora izmeĎu čestica. Prva faza u procesu sabijanja praha 
primenom mehaničkog pritiska je slaganje i razmeštanje čestica sa 
popunjavanjem jednog dela poroznosti. Sa daljim povećanjem pritiska 
omogućava se bolje pakovanje i ostvaruju se novi kontakti izmeĎu čestica praha. 
U poslednjoj fazi povećanja pritiska dolazi do postizanja veoma visoke gustine, 
























3. EKSPERIMENTALNI DEO 
                          3.1. Priprema uzoraka 
                              3.1.1. Dobijanje Cs-izmenjenih zeolita 
  Klinoptilolit (CLI) koji je korišćen u ovom radu potiče iz depozita 
Novaković (Prijedor, Bosna i Hercegovina). Novakovići – klinoptilolitski tuf je 
bele boje i sadrţi 90% zeolitne faze (klinoptilolit -hejlandit) uz male količine 
feldspata (anortita) i vulkanskog stakla (Prilog 1). Delimično izmenjeni 
klinoptilolit sa cezijumovim jonom je pripremljen nakon 5 izmena: 10 g zeolita 
je pomešano sa 200 ml 0,25 M rastvora CsCl (Cesium Chloride p.a ., VWR 
AnalaR NORMAPUR®, min 99,5% CsCl).     
  Kao početni material korišćen je i Na, Ca–LTA zeolit (Si/Al = 1.00) 
proizveden u Union Carbide Co.. Kristali zeolita, su sfernog oblika veličine 
izmeĎu 1,4-2,0 mm. Kuglice su smrvljene i pretvorene u prah. Delimično 
izmenjeni LTA zeolit sa cezijumovim jonom je pripremljen nakon 3 izmene: 10 
g zeolita je pomešano sa 200 ml 0,25 M rastvora CsCl (Cesium Chloride p.a ., 
VWR AnalaR NORMAPUR®, min 99,5% CsCl).    
  Hladno presovanje: Prahovi izmenjenih zeolita su presovani pod 
pritiskom od 60 MPa da bi se dobili kompakti sa dijametrom od ~10 mm i 
visinom od ~8 mm.  
 
3.2. Termički tretmani 
  Sinterovanje bez primene spoljašnjeg pritiska : Dobijeni prahovi Cs-
izmenjenog LTA zeolita i Cs-izmenjenog klinoptilolita su sinterovani bez 
primene pritiska na temperaturama od 600-1400 °C, i zadrţavanjem od 3 h na 
vazduhu, pri brzini grejanja 10 °C min
-1
.Ovaj tip uzoraka je u nastavku teksta 
nosio oznaku PLS. 
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 Toplo presovanje: Toplo presovanje praha Cs-izmenjenog LTA zeolita i Cs-
izmenjenog klinoptilolita je izvedeno u ASTRO peći koristeći grafitni kalup na 
temperaturama od 750 – 1000 °C, pod pritiskom od 35 MPa, i zadrţavanjem od 
3h, u atmosferi argona, pri brzini grejanja 10 °C min 
-1
.Ovaj tip uzoraka je u 
nastavku teksta nosio oznaku  TP. 
 
3.3. Metode karakterizacije 
      3.3.1. Rendgensko fluorescentna spektrometrija (XRF) 
  Da bi se odredio elementarni sastav uzoraka pre i posle jonske izmene 
izvršena je XRF analiza koristeći Thermo Scientific ARL Perform'X Sequential 
rendgensko fluorescentni spektrometar, opremljen sa Rh cevi, sedam 
monohromatora i sa spektrometrom disperzivnim prema talasnim duţinama. 
Podaci su dobijeni i obraĎeni koristeći Thermo Scientific UniQuant Analysis 
Software program za analizu. 
3.3.2.  Rendgenostrukturna difrakciona analiza (XRD) 
  Rendgenostrukturna difrakciona analiza izvršena je pomoću 
difraktometra za prah marke Ultima IV Rigaku, korišćenjem CuKα zračenja (λ = 
= 1,54184 Å), propuštenom kroz Ni-filter postavljen ispred detektora zračenja. 
Intenziteti difrakcionih maksimuma prikupljani su u intervalu od 4° do 80 
difrakcionog ugla (2θ), sa korakom od 0,02° θ i vremenom zadrţavanja od 1s po 
koraku za potrebe rutinske analize indentifikacije faza. Grafički prikaz 
difraktograma i njihova analiza (aproksimativna količina prisutnih faza) 
obavljeni su softverom PDXL 2. Za proračun parametara ćelije korišćen je 
programski paket FullProf [82]. Intenziteti difrakcionih maksimuma za proračun 
parametara jedinične ćelije prikupljani su u intervalu od 4° do 100 difrakcionog 






Veličina kristalita i mikronaprezanje su odreĎeni koristeći Vilijamson-Holov 
metod [83, 84] koji se sastoji u fitovanju istoimene jednačine. Za izračunavanje 
širenja linija korišćeno je 5 najintenzivnijih refleksionih pikova polucita i CAS 
faze. 
Vilijamson-Holova jednačina je:  𝐵𝑐𝑜𝑠𝜃 =  
𝐾λ
𝐷
+  2ε sin𝜃 
gde je : D - koherentna duţina rasejanja (veličina kristalita)  
K - konstanta čija je vrednost oko 0,9  
B - integralna širina difrakcione linije uzorka (u radijanima)  
ε – nehomogeno mikronaprezanje   
Širina svakog pika βexp je merena kao integralna širina. Instrumentalno širenje, 
βinst, je odreĎeno iz polikristalnog silikonskog standarda. Širenje pikova zbog 
veličine i naprezanja je izračunato preko Gausijanove raspodele: B2 = 𝛽𝑒𝑥𝑝
2 − 𝛽𝑖𝑛𝑠𝑡
2 . 
β– širina difrakcione linije nastala samo usled strukturnih faktora.  
 
 
  3.3.3. Diferencijalna termalna i termogravimetrijska analiza (DTA/TG)   
  Diferencijalna termalna i termogravimetrijska analiza Cs-imenjenog LTA 
zeolita uraĎena je simultano koristeći DTA/TG instrument TA SDT Model 2090, 
dok je ista analiza Cs-izmenjenog klinoptilolita uraĎena simultano koristeći 
DTA/TG instrument Setsys Evolution, Setaram, Francuska.  Uzorci zeolita, mase 
pribliţno 10 mg su analizirani na vazduhu brzine protoka 90 cm3 min -1. Brzina 
grejanja je iznosila 10 °C/min. 
3.3.4. Kompresiona čvrstoća 
  Ispitivanje kompresione čvrstoće sinterovanih uzoraka vršeno je pomoću 
ureĎaja Instron 1185 na sobnoj temperaturi pri brzini mosta od 2 mm/min. 
Kompresiona čvrstoća (σM), predstavlja odnos maksimalne pritisne sile (F) pri 
kojoj nastaje lom i prvobitne površine poprečnog preseka pastile (A) [85].  
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3.3.5. Gustina sinterovanih uzoraka i otvorena poroznost 
  Gustina sinterovanih uzoraka je merena Arhimedovom metodom koristeći 




Ms, Mn , Mm,Ms+u su mase suvog uzorka, uzorka natopljenog u vodi, zatim, masa 
mreţice i masa mreţice i uzorka uronjene u vodu, respektivno. Gustina 
dejonizovane vode je 0,998 g/cm
3
. 
Relativna gustina uzorka predstavlja odnos izmerene i njegove teorijske gustine. 




Teorijska gustina za višefazne sisteme je izračunata preko pravila smeša.  
Otvorena poroznost se definiše kao procentualni odnos zapremine svih pora koje 
su meĎusobno spojene, ili su spojenje sa spoljašnjom sredinom prema ukupnoj 
zapremini materijala. Ova strukturna karakteristika najčešće se odreĎuje 
postupkom merenja količine apsorbovane vode. Otvorena poroznost (%) = 
𝑉𝑝
𝑉
100%, Vp-zapremina svih šupljina i pora u materijalu, V-ukupna zapremina 
materijala.  
  3.3.6. Infracrvena spektroskopija sa Furijeovom transformacijom (FT-IC) 
  Infracrveni spektri (IC) uzoraka snimljeni su u središnjoj spektralnoj 
oblasti (Middle Infrared - MIR), u opsegu talasnih brojeva 400 - 1400 cm
-1
, s 
obzirom da je ova oblast osetljiva na topologiju mreţe. IC spektri su snimljeni na 
spektrofotometru FTIR MIDAC 4000 (MIDAC Corporation, Irvine California , 
USA) i Perkin Elmer Spectrum Two FT-IR, upotrebom tehnike KBr (Fisher 
Chemical) pastile. 
3.3.7. Skanirajuća elektronska mikroskopija (SEM)  
  Morfološka analiza Cs-izmenjenih prahova LTA zeolita i klinoptilolita pre i 
posle termalnih tretmana, kao i poliranih presovanih uzoraka i površina lomova je 
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izvršena korišćenjem dva skenirajuća elektronska mikroskopa: JEOL JSM -
6610LV i  SEM/EDS VEGA TS 5130 MM. Uzorci koji su polirani dijamantskom 
pastom snimani su u reţimu povratno-rasutih elektrona. Tanak sloj zlata debljine 
od 15 nm je deponovan na uzorcima a slike koje nastaju od sekundarnih 
elektrona su dobijene koristeći snop elektrona jačine 0,1nA ubrzanih na 20 i 
30kV.  
 
3.3.8. Test luženja cezijuma 
Test luţenja je sproveden koristeći standardnu ASTM C1220 -10 test metodu za 
statično luţenje [86]. Uzorci u obliku diska sa poznatim geometrijskim 
povšinama (S) su uronjeni u poznate zapremine (V) destilovane vode u 
hermetički zatvorenim teflonskim kivetama. Geometrijske površine diskova svih 
uzoraka su prikazane u tabeli 1. 
Odnos površina uzoraka i zapremine rastvora (S/V) je 10 m -1 za oba uzorka. 
Teflonske kivete su bile smeštene u sušnici na 90 C i zadrţane u periodu od 1-
28 dana. Sadrţaj cezijuma u tečnoj fazi bio je analiziran koristeći atomsku 
emisionu spektroskopiju (AES Aanalyst 700/Perkin-Elmer) kako bi se odredila 
količina otpuštenih jona.Vrednost pH rastvora za svaki uzorak je takoĎe odreĎen.  






)   
NL(i) – normalizovani elementarni gubitak mase  
Ci –koncentracija Cs jona u tečnoj fazi (g m
-3
), S-površina uzoraka (m2), V-
zapremina rastvora (m
3







Tabela 1. Vrednosti geometrijskih površina, poluprečnika (R) i visine (H) 
uzoraka u obliku diska (PLS-polucit, TP-polucit, PLS-CAS i TP-CAS) 
Uzorak S(m
2
) R(m) H (m) 
























































4. REZULTATI I DISKUSIJA 
 
           4.1. Jonska izmena cezijuma u zeolitima: LTA i klinoptilolitu 
  Jonska izmena cezijuma u zeolitu LTA izvršena je trostruko  ponovljenim 
postupkom izmene pri koncentraciji rastvora CsCl od 0,25M i odnosu 
komponenata čvrst praškast zeolit/rastvor = 1g/20ml.  
  Prema XRF analizi koja daje sastav površine  (Tabela 2.) početni uzorak 
LTA zeolita je u svom sastavu imao više katjona, pri čemu je u najvećem 
procentu sadrţavao jone natrijuma.  Nakon procesa izmene  značajno se 
promenio maseni procenat jona Na, i K  a malo sadrţaj  jona Ca, Fe i Mg. Prema 
XRF analizi dobijeni Cs-LTA zeolit sadrţi 24% masenih procenata cezijuma.  
  Bruto formula početnog uzorka izračunata na osnovu XRF analize (Tabela 
3.) pokazuje da on nema idealnu stehiometriju koja odgovara natrijumskoj formi 
LTA zeolita: NaAlSiO4 odnosno  Na12Al12Si12O48 . U uzorku se pojavljuje višak 
silicijuma i katjona u odnosu na jon aluminijuma što je posledica prisustva 
drugih jona u strukturi zeolita kao i mineralnog veziva jer je korišćen granulisani 
uzorak.   
  Bruto formula cezijum izmenjenog LTA (Tabela 3.) pokazuje da je jonska 
izmena delimična da su joni cezijuma uglavnom zamenili jone natrijuma  [87,88] 
tako da površina  uzoraka nakon jonske izmene sadrţi jednak broj jona natrijuma 








Tabela 2.  XRF analiza LTA zeolita pre i posle jonske izmene  
Elementi Na Mg K Ca Fe Cs Al Si O 
Pre jonske 
izmene mas.% 
12,05 1,09 0,21 1,20 0,70 0,00 16,63 22,62 45,5 
Nakon jonske 
izmene mas.% 
4,23 0,95 0,05 0,93 0,46 24,10 13,88 19,39 36,01 
 
 
    Tabela 3. Bruto formule jedinjenja LTA zeolita pre i posle jonske izmene  
Bruto formula  
pre izmene 
 Na0.84 M0.37 Al1.0 Si1.30 O4.6 
Bruto formula 
nakon izmene 
 Na0.35 M0.24 Cs0.35 Al1.0 Si1.35 O4.1 
 
Dobijeni rezultati su u skladu sa rezultatima koje navode K. Yoshida i saradnici 
da jonskom izmenom sa niskom koncentracijom Cs jona u vrednosti od 7,5 
mmol/L, od mogućih 12 jona u strukturi LTA zeolita joni Cs, izmenjuju 3 Na 
jona, pri čemu se smatra da je izmena jona bila iz pozicije S8R [89].  
  Da bi se izvršila provera da li jonska izmena u uslovima višestruko 
ponovljene procedure izmene i relativno visoke koncentracije Cs jona u rastvoru 
utiče na strukturu zeolita početni uzorak i uzorak izmenjenog zeolita su 
analizirani rendgenskom difrakcijom iz praha.  
  Na slici 22. su dati difraktogrami Na/Ca–LTA zeolita pre i posle jonske 
izmene. Sve refleksije koje se pojavljuju na difraktogramima mogu se indeksirati 
tako da pripadaju Na/Ca–LTA zeolitu a promena se javlja u odnosima intenziteta 
pojedinih refleksija sa izmenom vanmreţnog katjona. 
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Slika 22. Difraktogrami LTA zeolita: a) pre i b) posle jonske izmene jonima Cs. 
 
Stepen kristaličnosti LTA zeolita nakon izmene Cs se znatno smanjio, evidentno 
je prisustvo amorfne faze. Intenzitet refleksija je znatno niţi nego kod početnog 
uzorka. Ove promene intenziteta refleksija prilikom jonske izmene uočio je i 
B.X. Gu sa saradnicima [38] i pripisao ih je promenama rendgenskih strukturnih 
faktora izazvanih uvoĎenjem Cs u kristalnu strukturu. TakoĎe, iz rezultata 
prikazanih na slici 22. se uočava da u difraktogramu izmenjenog zeolita 
nedostaju dve refleksije na 2θ = 15,43° i 20,10° koje pripadaju početnom zeolitu, 
kao i da se pojavljuju nove refleksije na 2θ = 25,43° and 29,35°. Pojavu novih 
refleksija u radu B.X. Gu-a i saradnika objašnjavaju kao stvaranje sekundarne 
faze koja je zapravo Cs-bogati aluminosilikat [38]. Cs kao katjon sa većim 
brojem elektrona od Na mnogo bolje difraktuje elektrone stoga će intenziteti 




Jonska izmena cezijuma u zeolitu klinoptilolitu izvršena je tako što je postupak 
ponovljen pet puta pri čemu je koncentracija rastvora CsCl bila 0,25M i odnos 
komponenata čvrst, praškast zeolit/rastvor = 1g/20ml.   
Prema XRF analizi (Tabela 4.) početni uzorak klinoptilolita je u svom 
sastavu imao više katjona, pri čemu je u najvećem procentu sadrţavao jone Ca i 
K, dok je sadrţaj ostalih katjona (Na, Mg, Fe) znatno manji. Nakon procesa 
izmene  značajno se promenio maseni procenat jona Ca i K ali je opao i sadrţaj 
drugih jona, Na i Mg.  Dobijena je cezijumska forma klinoptilolita koja sadrţi 
više od 26 masenih procenata cezijuma.  
Tabela 4. XRF analiza pre klinoptilolita pre i posle jonske izmene  
Elementi Na Mg K Ca Fe Cs Al Si O 
 Pre jonske 
izmene mas.% 
0,21 0,65 2,72 3,58 0,43 0,00 7,93 35,45 49,03 
Nakon jonske 
izmene mas.% 
0,09 0,26 0,65 0,47 0,40 26,37 5,91 27,69 38,16 
 
 Na osnovu izračunatih bruto formula (Tabela 5.) se jasno vidi da je stepen 
zamene jona jonima Cs veoma visok, jer udeo jona cezijuma u uzorku ima vrednost 
0,9, dok su udeli svih drugih katjona znatno niţi. Od ukupnog broja vanmreţnih 
katjona katjoni Cs čine 81 %. 








 Na0.01M0.2 Cs0.90 Al1.0 Si4.5 O10.8 
 
Ovakav rezultat se mogao i očekivati imajući u vidu činjenicu da klinoptilolit poseduje 
strukturu koja u sebi sadrţi desetočlane prstenove (S10R) sa efektivnom širinom pora  
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dimenzija (5,5 x 3,1) Å (Slika 7a)). Dobijeni rezultat je u skladu sa rezultatima 
iz literature [53].   







































Slika 23. Difraktogrami klinoptilolita: a) pre i b) posle jonske izmene jonima Cs 
izmene. 
Na slici 23. su prikazani difraktogrami klinoptilolita pre i posle jonske 
izmene. Intenziteti refleksija početnog i izmenjenog uzorka su pribliţno iste, 
kao i udeo amorfne faze. Sve refleksije koje se pojavljuju na difraktogramima 
mogu se indeksirati tako da pripadaju klinoptilolitu uz male količine anortita 
(Prilog 1) a promena se javlja u odnosima intenziteta pojedinih refleksija sa 
izmenom vanmreţnog katjona. Iako postoji preklapanje odreĎenih refleksija, 
evidentno je da refleksija, koji se nalazi na 2θ = 9,71°, veoma jaka u početnom 
klinoptilolitu dok skoro potpuno nestaje u cezijumskoj formi. Do gašenja 
refleksije dolazi zbog toga što se Cs jon ugraĎuje u difrakcionu ravan (010) 
koja  utiče  na  intenzitet  ove refleksije [10]. TakoĎe, u Cs-klinoptilolitu rastu  
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inteziteti refleksije koje su karakteristični za tu fazu  (2θ = 12,70o, 26,58o i 
27,99
o) što je u saglasnosti sa literaturnim podacima [53].  
  Promena intenziteta refleksija koja nastaje nakon jonske izmene posledica 
je promene vrednosti strukturnog faktora za odreĎene refleksije jer je Cs jon 
uveden u kristalnu strukturu [38]. Cs kao katjon sa većim brojem elektrona od 
Ca i K mnogo bolje difraktuje elektrone stoga će intenziteti refleksija povećavati 
sa onih ravni u kojima se nalaze Cs katjoni. 
 
4.2. Fazne transformacije Cs izmenjenih zeolita  
Prikazani rezultati pokazuju da je maseni procenat jona Cs u dobijenim 
uzorcima blizak: 24,1% za Cs-LTA i 26,37% za Cs-CLI. MeĎutim zbog 
značajnih razlika u strukturi i hemijskom sastavu uzoraka udeo jona cezijuma u 
odnosu na ukupan broj vanmreţnih katjona ili stepen izmene jona cezijuma 
iznosi: 37% u slučaju Cs-LTA i 81% u slučaju i Cs-CLI. Na osnovu postignutog 
stepena jonske izmene, dobijeni materijali mogu biti pogodni za vezivanje jona 
cezijuma iz rastvora [23, 37, 39, 90, 91]. 
MeĎutim, jonska izmena je reverzibilan proces pa je ugraĎeni Cs jon pa je 
njegovo izluţenje ugraĎenog Cs jona u kontaktu sa vodom iz zeolita prilikom 
kontakta sa vodom očekivano [37, 38]. Jedan od načina da u duţem periodu 
vremena ne doĎe do izluţenja Cs jona je da se on inkorporira u neku stabilniju 
strukturu gde bi bio čvršće vezan bila bi termalna transformacija Cs -izmenjenih 
zeolita. 
Oba uzorka imaju u svom sastavu i druge katjone, pa je od značaja ispitati 
na kojim temperaturama će graditi stabilnije faze celzijum alumosilikata i dali će 






4.2.1. Fazne trasformacije Na/Cs –LTA zeolita 
  Dobijeni uzorci Na/Cs-LTA su termalno tretirani u neizotermalnim 
uslovima kako bi se metodama termalne analize uočile fazne transformacije koje 
prate ove procese u intervalu od 25-1000 °C (Slika 24). Na, Cs-LTA zeolit u 
endotermalnom procesu dehidratacije gubi 16 % svoje mase i ima izraţen 
endotermalni pik na DTA krivoj na temperaturi od 154 °C.  








































































































Slika 24. Simultane a) TG i b) DTA krive Na/Cs-LTA uzorka, u atmosferi 
vazduha pri brzini grejanja od 10 °C min
-1
 i c) deo DTA krive Na/Cs-LTA uzorka 
u intervalu od 800-1000 °C. 
  U temperaturskom intervalu izmeĎu 300 – 650 °C uočava se gubitak mase od 
oko 1% koji odgovara desorpciji čvrsto vezane vode za katjone i praćen je sa širokim 
endotermnim pikom koji poseduje minimum na 462 °C. Blago izraţeni egzotermni 
pikovi DTA krive na temperaturama iznad 900 °C nisu praćeni gubitkom mase, i 
odgovaraju faznim transformacijama u kojima se grade nove faze. Mogu se uočiti dva 
egzotermna pika na 900°C i 964°C, koji potiču od strukturnih transformacija zeolita. 
Proučene indukovane fazne transformacije Na-LTA zeolita [92] pokazuju da u  ovom 
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temperaturskom intervalu dolazi do stvaranja karnegita i nefelina dok Cs-LTA 
[23] daje polucit. 
       Nakon termalnog tretmana uzoraka Na/Cs-LTA u temperaturskom 
intervalu od 600-800 °C (tokom 3h) uzorci su analizirani XRD metodom (Slika 
25.). U temperaturskom intervalu izmeĎu sobne i 600 °C struktura izmenjenog 
Na/Cs–LTA se nije promenila, što se i očekuje jer u tom temperaturskom 
intervalu došlo samo do gubitka vode. U intervalu od 600-900 °C uzorak se 
amorfizovao. Rekristalizacija uzorka u novu fazu se javlja u temperaturskom 
intervalu od 900-1000 °C. Široki pikovi koji se javljaju u intervalu od 800-1000 
°C, prikazani na slici 24.c), indikacija su da je ovaj proces spor. Zbog toga su  i 
fazne transformacije praćene duţim zagrevanjem u trajanju od 3h na različitim 
temperaturama u intervalu od 800-1400 °C. 
  Analizom transformacionih procesa rendgenskom difrakcijom i 
prethodnom DTA/TG analizom (Slika 24.) utvrĎeno je da strukturna konverzija 
Na/Cs-LTA zeolitskog prekursora počinje dehidratacijom zeolitske mreţe 
praćene ne-topološkim promenama kristalne rešetke.Usled zagrevanja zeolita, 
molekuli vode se desorbuju iz strukture, a vanmreţni katjoni ostaju koordinisani 
samo jonima kiseonika iz mreţe što uzorkuje značajnu distorziju TO4 mreţe. 
  Dehidratacioni proces se odigrava u temperaturskom opsegu od 600-800 
°C (Slika 25 b,c,d). Kada se strukturna voda uklanja iz strukture zagrevanjem, 
vanmreţni katjoni se mogu kretati sa jednog mesta na drugo izazivajući 
preureĎenje poloţaja Cs katjona u mreţi zeolita [38]. Promena poloţaja van-
mreţnih vrsta, posebno Cs kao dominantnih jona u strukturi, u odnosu na njihove 
prvobitne pozicije, usled termalne aktivacije, podstiče fazni prelaz. Ova promena 
je najčešće izazvana potrebom za niţom energetskom konfiguracijom u 
raspoloţivom prostoru. 
 Nakon kompletne dehidratacije Na/Cs-LTA zeolita, daljim zagrevanjem na 
900 
C struktura se tranformiše u amorfni intermedijarni produkt (Slika 26e). 
Povećanje temperature dovodi do delimičnog raskidanja Si-O-Si i Si-O-Al veza i 
do potpunog kolapsa strukture [93]. Prilikom kolapsa strukture razgradnja T -O 
veza se ostvaruje prvo u D4R (dvostrukim četvoročlanim prstenovima).  
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Slika 25. Rendgenski difraktogrami uzoraka Na/Cs-LTA a) na sobnoj 
temperaturi i ţarenih na temperaturama: b) 600 °C c) 700 °C d) 800 °C e) 900°C 
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Slika 26. Rendgenski difraktogrami uzoraka Na/Cs-LTA ţarenih na 
temperaturama: a) 1100 °C b) 1200 °C c) 1300 °C d) 1400 °C, u trajanju od 3h. 
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  Moţe se pretpostaviti da ova razgradnja nastaje kao posledica povećane 
difuzije vanmreţnih katjona. Distorzija D4R SBU se ogleda u kompresiji duţ ose 
4.reda tj. duţ pravca kojim on povezuje beta kaveze. Najfleksibilnija SBU u 
strukturi je S6R koja povezuje alfa i beta kaveze. Ta fleksibilnost značajno utiče 
na fizičke i hemijske osobine zeolita LTA [57].  Na/Cs-LTA polimorf gubi 
ureĎenje na dugom dometu i postaje amorfan za X-zrake i na difraktogramu se ne 
uočava prisustvo refleksija. Na osnovu ovih pet tačaka moţe se stvoriti slika o 
mehanizmu fazne transformacije zeolita LTA, imajući u vidu da u amorfnom 
stanju postoje S4R i S6R SBU [57]. Konačna faza ove termalne transformacije 
obuhvata polimorfne transformacije u stabilnije kristalne faze. Dalje zagrevanje, 
na 1000 °C (Slika 25 f), izaziva rekristalizaciju uzorka i dovodi do formiranja 
novih faza: dominantne polucitne faze i prateće nefelinske faze na 2θ =21,31° i 
23,00° što je u saglasnosti sa podacima iz literature [23, 51].  Pojava nefelinske 
faze je očekivana i opravdana već spomenutom činjenicom, objašnjenom u 
prethodnom poglavlju, da se odreĎena količina Na jona ne moţe izmeniti sa Cs 
jonima i da ostaje u strukturi zeolita (Tabela 2.). TakoĎe, iz izračunatih molskih 
frakcija Na/Cs-LTA zeolita moţe se primetiti da jona Na u strukturi ima mnogo 
više od količine koja je nagradila nefelin (Tabela 2). Pošto je odnos Na i Cs jona 
pribliţno jednak jedinici a udeo nefelina u strukturi jako mali, moţe se zaključiti 
da se formirala Na/Cs-faza polucita. Zagrevanjem iznad 1000 °C dominantna 
polucitna faza ostaje stabilna sve do 1400 °C što je takoĎe slučaj i sa pratećom 
nefelinskom fazom. Iznad ove temperature uzorak počinje da se topi. Na 
temperaturi od 1200 °C struktura je najureĎenija (Slika 26b). Na temperaturi od 
1400 °C intenziteti refleksija se smanjuju. Nakon termalnih transformacija, uprkos 
strukturnim promenama, formirana dominantna visokotemperaturna faza pripada 
analcimskoj mreţnoj strukturi i ima istu kubičnu kristalnu formu kao i polazni 
Na/Ca-LTA zeolit. Ovo ukazuje da se procesi termalne transformacije odigravaju 
unutar svakog pojedinačnog kristalnog zrna, koji se moţe posmatrati kao zatvoreni 
mikroreaktor. Ipak, dobijena polucitna faza poseduje manju zapreminu kristalne 
rešetke (manji parameter jedinične ćelije) i uţe slobodne dijametre kanala od 
početnog, LTA zeolita (Slika 15. i 16.). Ova pojava se objašnjava osnovnim 
pravilima  statičke mehanike  koja  predviĎaju   gušće ureĎenje uzorka  koji je            
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prethodno dehidratisan tako što zeolitska voda, kao što je već spomenuto, 
napušta kristalnu strukturu ostavljajući prazan prostor u zeolitima. Dolazi do  
reverzibilne deformacije mreţne strukture sve sa ciljem da se smanji prazna 
zapremina koja je na sobnoj temperaturi ispunjena vodom. Tetraedri, koji se u 
prvoj aproksimaciji mogu smatrati krutim jedinicama [94-96] prilikom 
zagrevanja se reorjentišu u cilju da se celokupna zapremina smanji, smanjenjem 
veličine kaveza i kanala.  
 
  FT-IC (infracrvena spektroskopija) je metoda koja daje podatke o 
ureĎenju strukture na kratkom dometu.  FT-IC spektri Cs-izmenjenog (Na/Cs-
LTA) zeolita kao i termalno tretiranog Na/Cs-LTA na 1000 °C, odnosno Na/Cs-
polucita, su prikazani na slici 27. Najizraţenije razlike izmeĎu FT-IC spektara 
uzoraka se javlja u regionu od 400-1070 cm
-1
. Ovaj region pripada srednjoj 
infracrvenoj spektroskopskoj oblasti. Promene u intenzitetu i pozicijama traka, 
koje su povezane sa vibracijama unutrašnjih tetraedara i Si-O vibracijama koje 
se nalaze u zeolitnom lancu, su posmatrane u ovom regionu. 









 i 457 cm
-1
. Jaka  traka na  972 
cm
-1




 odgovaraju simetrično isteţućim vibracijama Si–O–Si i Si–O–Al 
veza, respektivno. Vibraciji dvostrukih prstenova odgovara traka koja se nalazi 
na 557 cm
-1
 dok se traka na oko 457 cm
-1
 moţe pripisati O-Si-O savijajućoj 
vibraciji.Tokom zagrevanja traka Na/Cs-LTA zeolita na 972 cm
-1
 (Slika 27b) 















































Slika 27. FT-IC spektri od a) Na/Cs –LTA b) Na/Cs-LTA ţarenog na 1000 C. 
Za uzorak Na/Cs-LTA zeolita ţarenog na 1000°C, ova traka se nalazi na 993 cm-1. 
Ostale karakteristične trake se pomeraju ka manjim vrednostima talasnih  brojeva 
(Slika 27b).  Na 697 cm
-1
 se nalazi traka koja se moţe pripisati simetrično -
isteţućoj vibraciji Si-O-Al.Vibraciji dvostrukog prstena odgovaraju tri trake 




 i 522 cm
-1
. Veoma slabe trake koje se 
nalaze na sledećim talasnim brojevima: 466 cm-1, 438 cm-1 i 424 cm-1, mogu se 




FT-IC spektri pokazuju sličnost sa spektrima koji se javljaju u literaturi a 
asignacija traka je u ovom radu izvršena u skladu sa literaturom [61, 97-99]. 
   
 Na osnovu dobijenih rezultata se moţe zaključiti da na faznu transformaciju 
imaju uticaj joni natrijuma i cezijuma, dok uticaj preostali joni zbog njihovog 
malog pojedinačnog  sadrţaja nije zapaţen. Izloţeni rezultati su u saglasnosti sa 
rezultatima iz literature [23, 39, 52]. 
 
4.2.2. Fazne transformacije Cs – klinoptilolita 
  Uzorci neizmenjenog klinoptilolita (CLI) i izmenjenog sa jonima Cs (Cs-
CLI),  su termalno tretirani u neizotermalnim uslovima kako bi se metodama 
termalne analize uočile fazne transformacije koje prate ove procese u intervalu 
od 25-1000 °C (Slika 28.) i od 25-1200 °C  (Slika 29.), respektivno. Cs-CLI u 
odnosu na početni klinoptilolit pokazuje znatne razlike u termalnoj analizi. 
Najveća razlika se moţe uočiti u pogledu gubitka mase što je u stvari posledica 
dehidratacije.  
  Početni uzorak klinoptilolita najveći gubitak mase pokazuje u intervalu od 
25-500 °C i to 14% što potiče od slabo vezane vode u zeolitskim kanalima. Pri 
višim temperaturama dolazi do blagog gubitka mase od 1% što se moţe pripisati 
dehidroksilaciji OH grupa iz klinoptilolitske strukture. Za razliku od početnog 
uzorka Cs-izmenjeni klinoptilolit (Cs-CLI) ima dve karakteristične oblasti u 
kojima gubi masu. Prva oblast je u intervalu od 25-500 °C po obliku vrlo slična 
onom koja je zapaţena kod početnog klinoptilolita i druga oblast koja započin je 
iznad 700 
oC i završava se na oko 1000 °C. U prvoj, nisko temperaturskoj oblasti 
gubitak mase iznosi 13% i pripisuje se dehidrataciji slabo vezane vode u 
zeolitskim kanalima. U drugoj, visoko temperaturskoj oblasti gubitak mase 
iznosi 12 %. Ovako veliki gubitak mase u oštrom prelazu moţe poticati od 
strukturno vezane vode ili dehidroksilacije hidroksilnih grupa koje su nastale 

































































Slika 28. Simultane a) TG i b) DTA krive uzorka klinoptilolita, posmatrane u 




  Čist klinoptilolit na 477 °C poseduje mali egzotermni pik dok Cs-
klinoptilolit na 488 °C poseduje izraţeniji egzotermni pik. Oba pika se mogu 
pripisati simultanim procesima i to: transformaciji klinoptilolita u izostrukturnu 
formu hejlandita [100] koja predstavlja egzoterman proces i procesu 
dehidratacije koji je endoterman. Zbog toga su pikovi mali kod oba uzorka. Kod 
početnog uzorka u visoko temperaturskoj oblasti, u regionu izmeĎu 600-900 °C, 
javljaju se blago naglašeni pikovi veoma slabog intenziteta. Kod Cs -izmenjenog 
zeolita javlja se pik na 947 °C koji je endoterman i slabog intenziteta što moţe 
biti posledica dehidroksilacije (koja je po prirodi endoterman proces) i nekih 
































































Slika 29. Simultane a) TG i b) DTA krive uzorka Cs-klinoptilolita, posmatrane u 
atmosferi vazduha brzini grejanja od 10 C min-1. 
 
 
       Nakon termalnog tretmana uzoraka Cs-CLI u temperaturskom 
intervalu od 600-1300 °C (tokom 3h) uzorci su analizirani XRD metodom 
(Slika 30 i 31.). Posmatrajući uzorak Cs-CLI na sobnoj temperaturi i uzorak 
termalno tretiran na 600 °C moţe se primetit i da se struktura Cs-CLI nakon 
termalnog tretmana nije promenila, što je u saglasnosti sa DTA/TG 
analizom. U ovom temperaturskom intervalu, izmeĎu sobne i 600 °C je 




 intenziteta refleksija. Uzorak ţaren na 600 °C pokazuje znatno manji intenzitet 
karakterističnih klinoptilolitskih refleksija što se moţe i očekivati jer 
dehidrataciju prati narušavanje strukture. Usled zagrevanja zeolita, molekuli 
vode se desorbuju iz strukture, a vanmreţni katjoni ostaju koordinisani samo 
jonima kiseonika iz mreţe što uzorkuje značajnu distorziju TO4 mreţe. Kada se 
zeolitna voda uklanja iz strukture zagrevanjem, vanmreţni katjoni postaju 
pokretljivi i izazivaju preureĎenje Cs katjona u mreţi zeolita [38]. Promena 
poloţaja van-mreţnih vrsta posebno Cs kao dominantnih jona u strukturi, u 
odnosu na njihove prvobitne pozicije, usled termalne aktivacije, podstiče fazni 
prelaz. Ova promena je najčešće izazvana potrebom za niţom energetskom 
konfiguracijom u raspoloţivom prostoru. 
  U temperaturskom intervalu izmeĎu 600 i 900 °C se odvija spori proces 
rušenja klinoptilolitske strukture koja se još moţe indicirati na 900 °C, ali je 
njena ureĎenost mala, zato je intenzitet karakterističnih refleksija vrlo nizak. 
Nakon zagrevanja uzorka na 1000 °C dolazi do potpune dehidroksilacije i uzorak 
se transformiše u amorfni intermedijerni produkt (slika 31a)). Cs-CLI gubi 
ureĎenje na dugom dometu i postaje amorfan za X-zrake i gube se refleksije na 
difraktogramu. Amorfnu strukturu zadrţava i na 1100 °C (Slika 32b)). U 
temperaturskom intervalu od 1000-1100 °C se odvijaju strukturne promene, 
odnosno, dolazi do reorganizacije sekundarnih izgraĎivačkih jedinica u 
prekursorskoj fazi.  Daljim zagrevanjem, na 1150 °C, uzorak rekristališe i 
formira potpuno novu kristalnu fazu što je u saglasnosti i sa rezultatima do kojih 
su došli i A Brundu i G. Cerri [53]. Struktura ortorombične kristalne faze 
CsAlSi5O12 (cezijum dodekaokso alumino pentasilikat) koji poseduje CAS 
mreţnu strukturu je prepoznatljiva na rendgenskim difraktogramima i odgovara 
svim refleksijama, kao što se moţe videti na slici 31c), d), e). Zagrevanjem iznad 
1200 °C dominantna CAS faza ostaje stabilna sve do 1300 °C. Iznad ove 
temperature počinje da se topi.    
 56 
 



































Slika 30. Rendgenski difraktogrami Cs-CLI a) na sobnoj temperaturi i ţarenih na 
temperaturama: a) 25 
o
C,  b) 600 °C,  c) 700 °C,  d) 800 °C i e) 900 °C, u 
trajanju od 3h. 
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Slika 31. Rendgenski difraktogrami uzoraka Cs-CLI ţarenih na temperaturama: 
a) 1000 °C, b) 1100 °C, c) 1150 °C, d) 1200 °C i e) 1300 °C, u trajanju od 3h. 
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Nakon termalnih transformacija, formirana visokotemperaturna faza ne zadrţava 
istu kristalnu formu kao Cs-CLI. Cs-CLI je monokliničan dok je CAS faza 
ortorombična. Novonastala CAS faza poseduje manju zapreminu kristalne 
rešetke i uţe slobodne dijametre kanala od početnog zeolita (Slika 10. i 11.). Ova 
pojava se objašnjava osnovnim pravilima statičke mehanike koja predviĎaju 
gušće ureĎenje uzorka koji je prethodno dehidratisan tako što zeolitska voda, kao 
što je već spomenuto, napušta kristalnu strukturu ostavljajući prazan prostor u 
zeolitima. Dolazi do reverzibilne deformacije mreţne strukture sve sa ciljem da 
se smanji prazna zapremina koja je na sobnoj temperaturi ispunjena vodom. 
Tetraedri, koji se u prvoj aproksimaciji mogu smatrati krutim jedinicama [94-96] 
prilikom zagrevanja se reorjentišu u cilju da se celokupna zapremina smanji, 
smanjenjem veličine kaveza i kanala. Klinoptilolit poseduje odnos Si/Al ~ 5 
stoga, sadrţi višak silicijuma, pa se umesto polucita gradi CsAlSi5O12 faza što je 
i u saglasnosti sa podacima iz literature [44]. 
 
  FT-IC spektri Cs-izmenjenog klinoptilolita kao i Cs-izmenjenog 
klinoptilolita ţaren na 1150C su prikazani na slici 32. Najizraţenije razlike 
izmeĎu FT-IC spektara uzoraka se javlja u regionu od 400-1200 cm-1. 











 i 462 cm
-1
. Jaka traka na 1063 cm
-1
 
se moţe pripisati asimetrično isteţućoj vibraciji Si(Al) -O. Slaba traka na 785 cm-
1
 odgovara simetrično isteţućoj vibraciji Si-O-Si dok ostale dve slabe trake na 
717cm
-1
 i 666 cm
-1
 odgovaraju simetrično isteţućoj Si-O-Al vibraciji. Na 
talasnom broju od 462 cm
-1
 nalazi se traka koja se moţe pripisati O-Si-O 
savijajućoj vibraciji. Vibraciji petočlanog prstena se moţe pripisati traka koja se 














































Slika 32. FT-IC spektri a) Cs-CLI b) Cs-CLI ţarenog  na 1150 C. 
 
  Iz priloţenih FT-IC spektara se moţe zaključiti da je traka, koja se nalazi na 
1063 cm
-1
 talasnom broju, karakteristična kako za jonski izmenjen Cs-CLI tako i za 
termalno tretiran Cs-CLI na 1150 °C. TakoĎe, prilikom zagrevanja uzorka dolazi do 
promena u spektru u opsegu od 800-500 cm
-1
 odnosno do formiranja dve trake na 
779cm
-1
 i 558 cm
-1





petočlanog prstena, respektivno . FT-IC spektri pokazuju sličnost sa spektrima 
koji se javljaju u literaturi a asignacija traka je u ovom radu izvršena u skladu sa 
literaturom [97-99, 101, 102].   
Iz izloţenih rezultata se vidi da je čak i u slučajevima kada se koriste 
zeoliti koji se sastoje iz više katjona (katjonske mešavine) visokotemperaturnim 
faznim transformacijama se dobijaju znatno stabilnije faze. Moguće je dobijanje 
strukture polucita iz Na/Ca-LTA zeolita i CAS faze polazeći od prirodnog 
klinoptilolita. Ove strukture su, sa stanovišta imobilizacije Cs jona, stabilnije od 
polaznih. Svi prethodno dobijeni rezultati nam ukazuju da prirodni zeoliti kao i 
sintetički koji su komercijalno lako dostupni predstavljaju vrlo jeftine sirovine i 
kao takvi mogu biti od velikog interesa za potencijalnu primenu imobilizacije 
radioaktivnih izotopa Cs. 
 
4.2.3. Molarne zapremine sintetizovanih faza polucita i CAS faze 
  Da bi se potvrdila činjenica da novonastale faze, koje se dobijaju prilikom 
termalno indukovanih faznih transformacija, poseduju manju zapreminu kristalne 
rešetke od početnih uzoraka zeolita  izračunate su vrednosti parametara jedinične 
ćelije (Tabela 6.) Dobijeni podaci su u saglasnosti sa vrednostima iz literature 
(Tabela 7.). Za proračun parametara jedinične ćelije korišćen je programski 
paket FullProf.  Jedinična ćelija za uzorak CAS faze računata je u prostornoj 
grupi  Bbm2, za uzorak Cs-CLI je računata u prostornoj grupi C2/m a za uzorak 
Na/Cs-polucita je računata u prostornoj grupi I a -3 d. Parametri jedinične ćelije 
Na/Cs-LTA zeolita zbog prisustva veziva nisu mogli precizno da se izračunaju, 
pa će se za dalje potrebe ovog rada koristiti podaci iz literature. Iz priloţenih 
tabela 6.i 7. moţemo videti da su se zapremine jedinične ćelije smanjile prilikom 
faznih transformacija: Cs/Na-LTA  Na/Cs-polucit  i Cs-CLI  CAS.  Sa 
termodinamičkog aspekta, zbog ove karakteristike moglo bi se očekivati, kada bi  
se primenio i spoljašnji pritisak tokom termalnog tretmana, da se značajno smanji 





se moţe objasniti Klauzijus-Klapejronovom jednačinom ako se pretpostavi da su 
sistemi u ravnoteţi. 
Klauzijus-Klapejronova jednačina za dve faze (α i β) koje se nalaze u ravnoteţi 
glasi: 
                                                 
dP
dTeq
 =  
∆H
Teq ∆V
                                                           (4. 1.) 
gde je Teq - ravnoteţna temperatura, P-pritisak, ΔV-razlika molarnih zapremina i 
ΔH-razlika entalpija α i β faze, respektivno. Ova jednačina sledi iz 
termodinamičkog razmatranja koje sledi u daljem tekstu.  
  Za sistem se kaţe da je u ravnoteţi kada je se nalazi u najstabilnijem 
stanju tj. ne pokazuje ţelju da se menja ad infinitum. (dG = 0  sistem je u 
ravnoteţi; G je Gibsova slobodna energija). Ako dve faze u ravnoteţi (G β = Gα): 
α – početna i β – krajnja faza, imaju različite molarne zapremine (Vm = 
NAVcell/Z)
* njihove slobodne energije neće porasti za isti iznos na datoj 
temperaturi i ravnoteţa će, dakle, biti narušena promenama pritiska. Jedini način 
da se odrţi ravnoteţa na različitim pritisc ima je da se menja temperatura.  














Ako su α i β faze u ravnoteţi tj. vaţi Gα = Gβ odnosno dGα = dGβdobija se 
sledeća jednačina:    














     ( 4. 2.) 
Ova jednačina daje promenu u temperaturi dT potrebnu da bi se odrţavala 
ravnoteţa izmeĎu α i β faze ako je pritisak povećan za dP. Jednačina 4.2. moţe 






Stoga, stavljajući ΔG= Gβ- Gα , odnosno ΔG = ΔH – TΔS ,  a pošto u stanju 




Sledi da jednačina 4.2. postaje  
                                                 
dP
dTeq
 =  
∆H
Teq ∆V
.                                                   (4.3) 
  Kod sistema gde konačna β faza ima manju molarnu zapreminu i višu 
entalpiju od početne α faze odnosno vaţi sledeće:∆𝑉 =  𝑉𝑚
𝛽
− 𝑉𝑚




molarne zapremine alfa i beta faze, respektivno) i  ∆𝐻 = 𝐻
𝛽
−𝐻𝛼 >  0 (Hα, Hβ-
entalpije alfa i beta faze, respektivno) odnos (dP/dT) je negativan, tj. porast 
pritiska sniţava ravnoteţnu temperaturu prelaza iz jedne faze u drugu [103].   
  U slučaju konkretna dva sistema Cs/Na-LTA  Na/Cs-polucit  i Cs-CLI 
 CAS,  α  fazu ili početnu fazu predstavljaju Cs/Na-LTA i Cs-CLI,  a β fazu ili 
krajnju fazu predstavljaju Na/Cs-polucit i CAS. Vrednosti entalpija stvaranja i 
molarne zapremine za alfa i beta faze se nalaze u tabeli 7. za oba sistema koja se 
proučavaju. Kada za oba sistema upotrebimo ove vrednosti dobijamo da je u oba 
sistema odnos (dP/dT) negativan, pošto su molarne zapremine početnih faza oba 
sistema veće a entalpije stvaranja manje u odnosu na krajnje faze.  
 
























Tabela 7. Karakteristike Na/Cs-polucita [104], Na/Cs-LTA [105], CAS faze [13] 





















Kubičan Ia3d 2565,00 1 4321,11[106] 1545,43 
Na/Cs-
LTA 
Kubičan Fm-3c 14886,00 1 3104[107] 8965,80 
CAS Ortoromibičan Ama2 1155,90 2 5805[108] 348,099 
Cs-CLI Monokliničan C2/m 2097,06 1 19933,78[109] 1263,05 
*NA-Avogadrova konstanta, Vcell – zapremina jedinične ćelije, Z- Broj jediničnih 
formula u jediničnoj ćeliji.  
 
  Imajući u vidu da su zeoliti mikrokristalni prahovi, za eventualnu primenu 
ovih materijala a naročito njihovih visoko temperaturskih faza za koje su te 
temperature stabilne, od interesa je i ispitati osobine ovih sistema u uslovima 
toplog presovanja, odnosno simultane primene visokih temperatura i mehaničkog 
pritiska. Osim što će se dobiti kompaktne forme, toplim presovanjem se moţe 
očekivati da će temperatura i pritisak značajnije uticati na sniţavanje 
temperature rekristalizacije kao što je to teorijski i dokazano  [103]. Ova metoda 
će se u ovoj disertaciji uvesti kao nova metoda za sintezu stabilnih cezijum-
aluminosilikata: polucita (CsAlSi2O6) i CAS faze (CsAlSi5O12) na niţim 









4.3. Uticaj uslova sinterovanja na temperaturu formiranja polucita  
 
 
Korišćenjem tople prese temperatura potrebna za formiranje polucita je 
sniţena, kao što se moţe videti sa difraktograma Na/Cs-LTA zeolita 
sinterovanog sa i bez primene spoljašnjeg pritiska na temperaturama od 750 °C 
do 1000 °C, slike 33 i 34. 
 





































Slika 33. Rendgenski difraktogrami Na/Cs-LTA sinterovani bez primene pritiska 
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 nefelin (Na2AlSiO4) 
polucit (CsAlSi2O6)
 
Slika 34. Rendgenski difraktogrami Na/Cs-LTA toplo presovan na a) 600 °C i b) 
750 °C u trajanju od 3h. 
  Sa difraktogama predstavljenih na slici 34. moţe se videti da se struktura 
Na/Cs-LTA transformisala u amorfni intermedijarni produkt na 600 °C. Toplim 
presovanjem Na/Cs-LTA zeolitni prekursor na temepraturi od 750 °C rekristališe 
u polucit za razliku od uzorka sinterovanog bez primene pritiska koji ima 
amorfnu strukturu na 900 °C (Slika 33.). Kao što je poznato, toplo presovanje je 
sumultana primena povišene temperature i pritiska. Pritisak povećava difuziju, 
što rezultuje smanjenjem temperature potrebne za proces sinterovanja. U ovom 





Jedinična ćelija za uzorke polucita računata je u prostornoj grupi I a-3 d.Vrednosti 
su sumirane u tabeli 8. Moţe se zaključiti da su vrednosti iste u  okviru tri 
standardne devijacije. 
















  Veličina kristalita i mikronaprezanje uzoraka PLS-polucita i TP-polucita 
(sinterovanih na 1000 °C bez primene pritiska i toplo presovanih na 750 °C) su 
odreĎeni Vilijams Holovom metodom na osnovu širina na poluvisini maksimuma 
sledećih refleksija: (211), (321), (611), (631), (721) i predstavljeni su u tabeli 9.  
Moţe se primetiti da uzorak TP-polucita poseduje manju vrednost veličine 
kristalita i niţe mikronaprezanje. Niţa vrednost mikronaprezanja TP-polucita 
ukazuje na manji broj defekata u ovoj strukturi, dajući nagoveštaj njegovoj većoj 
stabilnosti.Treba naglasiti da je ovo samo gruba procena veličine kristalita, jer 












Tabela 9.Vrednosti veličine kristalita i mikronaprezanja TP-polucit i PLS-
polucit (dobijenih uzoraka polucita sa toplom presom na 750 °C i sinterovanjem 



















Slika 35. Morfologija čestica a) PLS-polucita i b) TP-polucita. 
 
Na slici 35. prikazane su SEM mikrografije čestica sprašenih uzoraka 
PLS-polucita i TP-polucita pri uvećanju od 2000 puta. Čestice, koje su pretrpele 
proces sinterovanja, su uglavnom aglomerati različitih oblika. Veličine takoĎe 
variraju i kreću se od par mikrona do 30 mikrona. Moţe se pretpostaviti da su 
čestice od par mikrona zapravo zrna. Čestice sprašenog TP-polucita su više 
aglomerisane od čestica PLS-polucita. Ovi rezultati nam ukazuju da se uzorak 





Tabela 10. Kompresiona čvrstoća, gustina i otvorena poroznost uzoraka:        














PLS-polucit 18,00 1,931 65,91 7,619 
TP-polucit 50,21 2,780 94,88 2,230 
 
  Kompresiona čvrstoća je mera mehaničke otpornosti materijala. Prosečna 
vrednost kompresione čvrstoće je predstavljena u tabeli 10. Moţe se videti da 
čvrstoća od uzorka TP-polucita je znatno veća nego od PLS-polucita. Primena 
spoljašnjeg  pritisaka ubrzava proces sinterovanja i time poboljšava gustinu. 
Imajući u vidu da teorijska gustina uzoraka (TP-polucit i PLS-polucit), koji 
sadrţe 92% polucitne i 8 % nefelinske faze, iznosi 2,93 (g cm -3) moţe se 
izračunati da relativna gust ina od TP-polucit-a iznosi 94,88% od teorijske dok 
gustina od PLS-polucit-a je samo 65,91% od teorijske.  
  TakoĎe je vaţno istaći razliku izmeĎu veličine i oblika pora. Na slici 
36.su prikazane pore u uzorku TP-polucit koje su uglavnom izolovane sa 
prečnikom blizu 5 mikrona. Sa druge strane, manje pore u uzorku PLS-polucit se 
najčešće povezuju stvarajući velike, izduţene pore koje se sastoje od nekoliko 
predominantnih sfernih pora. Moţe se pretpostaviti da su ove izduţene pore, 
koje mogu biti preko 10 mikrona u duţini, odgovorne za slabu kompresionu 
čvstoću sinterovanih uzoraka bez primene pritiska.  
  Na osnovu prethodno prikazanog, moţe se zaključiti, da na osnovu 
mehaničkih karakteristika, polucit dobijen toplim presovanjem (TP-polucit) 











Slika 36. Posmatranje pora uzorka: a) PLS-polucit b) TP-polucit. 
 
  Skanirajuća elekronska mikrografija Na/Cs-LTA uzorka (Slika 37.) 
pokazuje uniformnu čestičnu morfologiju. Sve čestice Na/Cs-LTA zeolita imaju 
kubičan oblik veličine nekoliko mikrona.  
 
 
Slika 37. SEM mikrograf Cs-LTA zeolita 
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  Mikrografi površine preloma peleta sinterovanih uzoraka PLS-polucit i TP-
polucit su predstavljeni na slici 38. Površine preloma su tipične za krte materijale 
jer su primećeni i intergranularni i transgranulani prelomi. Aglomerati čestica  se 
mogu videti u oba uzorka. Sa mikrografa izlomljenog PLS-polucita se moţe 
primetiti da se isti uzorak sastoji od delimično sjedinjenih aglomerata nepravilnog 
oblika koji su veličine od nekoliko mikrona, kao i velikih blokova, što znači da 
sinterovanje bez primene pritiska nije dovelo do stvaranja čvrstih aglomerata. Ovo 
je očekivano imajući u vidu krhkost uzorka sinterovanog na 1000 °C tj. razlici u 
čvrstoći i gustini oba uzorka. Sa mikrografa izlomljenog uzorka TP-polucita moţe 
se videti da su se aglomerati sjedinili i spojili, što ukazuje na dovoljno sinterovanje 
zeolitnih čestica. Kompakcija praha korišćenjem tople prese obezbeĎuje bolji 
kontakt izmeĎu čestica i samim tim ubrzava transport  mase tokom ţarenja. 
  
 
Slika 38. Površina preloma uzorka dobijenog: a) PLS-polucit i b) TP-polucit. 
 
  Heterogenost uzoraka  
  Mikrografije oba uzorka, PLS-polucit i TP-polucit, snimljene povratno rasutim 
elektronima (SEM-BSE), su predstavljene na slici 39. koja jasno pokazuje heterogenost 
u sastavu. Heterogenost koja se uočava na mikrografijama se moţe pripisati prisustvu 
Na-obogaćenim i Cs-obogaćenim domenima polucita kao što je prethodno ustanovljeno  
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od strane Teerestre i saradnika [110]. Značajna razlika  u gustini elektrona izmeĎu 
Na i Cs dominira, rezultujući drugačijim mikrografijama dobijenim povratno 











Kao rezultat, mikrografije (SEM-BSE) uzoraka direktno reflektuju varijacije u 
koncentraciji Cs u posmatranom regionu. Najsvetlija faza je polucit koji se 
sastoji od velike količine Cs tzv. Cs-obogaćeni polucit. Nešto tamnija faza je 
polucit sa nešto niţom koncentracijom Cs jona i to je tzv. Na-obogaćeni polucit.  
Konačno, najtamnija faza je nefelin koja u svojoj strukturi ne sadrţi Cs. 
Amorfna faza nije pronaĎena što  je u saglasnosti sa rezultatima 
rendgenostrukturne analize.  




O Na Mg Al Si Ca Cs 
a)        
1 47,83 5,13  7,33 8,48  4,04 
2 47,96 5,55  7,49 8,33  4,68 
3 45,98 4,02 0,18 6,61 7,70  4,76 
4 47,69 1,95 0,55 6,61 8,94  7,37 
5 46,52 1,55 0,69 6,36 8,06  6,77 
6 42,52 1,08 1,73 4,66 7,01  4,88 
7 49,56 6,33  7,98 9,23 0,46 1,91 
b)        
1 40,80   0,13 8,36   
2 36,73 3,01  3,54 3,88  1,62 
3 35,39 2,83  3,34 3,66  1,53 
4 35,77 2,91  3,32 3,87  1,60 
5 34,24 0,75 0,25 3,07 3,69  2,68 
6 35,56 0,63 0,31 3,36 3,82  3,02 











4.3.1. Test luženja PLS-polucita i TP-polucita 
 
  Luţenje Cs iz PLS-polucita i TP-polucita u dejonizovanoj vodi na 90 °C 
je predstavljeno na slici 40. Oba uzorka pokazuju varijacije normalizovanih 
brzina otpuštanja i pH vrednosti tečne faze u kojoj je otpušten cezijum (ličat) sa 
vremenom luţenja. Normalizovani gubici mase Cs, za PLS-polucit i TP-polucit, 
prate sličan trend sa vremenom: nakon 1 dana luţenja Cs, vrednosti 
normalizovanog gubitka mase PLS-polucita, na 90 °C, (0,602 g/m
2) je nešto veća 
od vrednosti normalizovanog gubitka mase TP-polucita (0,385 g/m
2
). Nakon 28 
dana vrednosti dostiţu do 2,602 g/m2 i 3,7352 g/m2, respektivno. Konstanta 
brzine luţenja Cs za TP-polucit iznosi 0,0835 (g/m2)/dan dok ista za PLS-polucit 
iznosi 0,117(g/m
2
)/dan. pH vrednosti postepeno rastu sa vremenom luţenja i 
doseţu vrednost od 6,6 nakon 28 dana luţenja.  Ovo se moţe pripisati reakciji 
jonske izmene izmeĎu cezijuma u oba čvrsta uzorka i vodonikovog jona u 
rastvoru. Stoga, termalni tretman Na/Cs-LTA zeolita povećava njegov kapacitet 
zadrţavanja tako što zadrţava ove jone unutar rezultujuće (konačne) kristalne 
strukture.  
  Na osnovu ovih rezultata moţe se pretpostaviti da otpušteni Cs joni mogu 
originalno da potiču od istih koji se nalaze na površinskim slojevima kristalne 
strukture polucita. Tako da, niţa vrednost brzine  luţenja Cs iz TP-polucita je 
posledica njegove veće gustine i niţe otvorene poroznosti u poreĎenju sa PLS -
polucitom. Na ovaj način, difuzija Cs jona je u velikoj meri sprečena.  
















Slika 40. Statičko jonsko luţenje u dejonizovanoj vodi na 90 °C od TP-polucita i 
PLS-polucita a) promena normalizovanog gubitka mase Cs u odnosu na vreme 
























































  Teško je precizno uporediti analize luţenja sličnog materijala različitih 
istraţivačkih grupa. Razlog leţi u činjenici da različite grupe odreĎuju luţenje 
pod različitim uslovima kao što su: temperatura, vreme, odnos površine uzorka i 
zapremine rastvora. U nekim slučajevima drugačija je i aparatura. Rezultati 
analiza su uglavnom dati kao gubitak mase po površini uzorka, što omogućava 
pribliţno poreĎenje rezultata luţenja materijala koji su dobijeni merenjem pri 
sličnim uslovima.  Na primer, u radu Yanagisawe i saradnika [26]  je pronaĎeno 
da nakon luţenja od sedam dana vrednost brzine luţenja iznosi 3,15  (g/m2)/dan 
što je znatno viša od onoga što je dobijeno u ovoj studiji gde nakon 7 dana 
brzina luţenja je iznosila 0,1 i 0,11 (g/m2)/dan za TP-polucit i PLS polucit, 




















4.4. Uticaj uslova sinterovanja na temperaturu formiranja 
CAS faze 
 
  Sa difraktogama predstavljenih na slikama 41. i 42. moţemo videti razlike 
u temperaturi pri kojima se dešava fazna transformacija.  
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Slika 41. Rendgenski difraktogrami Cs-CLI sinterovani bez primene pritiska na 




    
  Uočava se da je na 800 °C primenom toplog presovanja postignuta 
amorfizacija Cs-CLI. Na difraktogramu toplo presovanog uzorka Cs-CLI na 900 
°C se uočava kristalna CAS faza za razliku od uzorka sinterovanog bez primene 
pritiska kod koga na istoj temperaturi još nije došlo do amorfizacije uzorka. Do 
amorfizacije uzorka dolazi tek na 1000 C (Slika 41).  
 























  CAS (CsAlSi5O12)  
    
 
 





Slika 42. Rendgenski difraktogrami Cs-CLI toplo presovan na a) 800 °C i  b) 
900 °C, u trajanju od 3h.  
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  Kao što je poznato, toplo presovanje je simultana primena povišene 
temperature i mehaničkog pritiska. Pritisak povećava difuziju, što rezultuje 
smanjenje temperature potrebne za proces sinterovanja. I u ovom slučaju, 
temperatura za dobijanje CAS faze je spuštena za 250 stepeni.  
  Jedinična ćelija za uzorke CAS faze računata je u pro stornoj grupi 
Bbm2.Vrednosti su sumirane u tabeli 12. Moţe se zaključiti da se razlika veća 
od tri standardne devijacije javlja kako kod parametara ćelije (c) tako i kod 
ukupne zapremine ćelije.  














13,823(2) 16,757(2) 5,0467(4) 1168,9(2) 
 
 
  Veličina kristalita i mikronaprezanje uzoraka PLS-CAS i TP-CAS 
(sinterovanih na 1150 °C bez primene pritiska i toplo presovani na 900 °C) su 
odreĎeni Vilijams Holovom metodom na osnovu širina na poluvisini maksimuma 
sledećih refleksija:  (040), (520), (620), (340), (402)  koji su predstavljeni u 
tabeli 13. Moţe se primetiti da uzorak PLS-CAS poseduje duplo manju vrednost 
veličine kristalita u odnosu na uzorak TP-CAS. Uzorak PLS-CAS poseduje 
zanemarljivo višu vrednost mikronaprezanja. Mikronaprezanje koje se javlja u 
uzorcima, a manifestuje se širenjem odreĎenih refleksija, posledica je prisustva 



























Slika 43. Morfologija čestica a) PLS-CAS-a i b) TP-CAS-a. 
   
 Na slici 43. prikazane su SEM mikrografije čestica sprašenih uzoraka PLS -
CAS i TP-CAS pri uvećanju 2000 puta. Čestice, koje su pretrpele proces 
sinterovanja, su uglavnom aglomerati različitih oblika. Čestice sprašenog PLS -
CASa su više aglomerisane od čestica TP-CASa. Aglomerati PLS-CAS poseduju 
oštre ivice, i veličine od par mikrona do 20 mikrona. Čestice TP-CASa su manje 
od čestica PLS-CASa sa zaobljenim ivicama i veličinama zrna od par mikrona. 
TakoĎe, poseduju i manji broj većih čestica od desetak mikrona. Ovi rezultati 




Tabela 14. Kompresiona čvrstoća, gustina i otvorena poroznost uzoraka       














PLS-CAS 190 2,47 87,31 5,37 
TP-CAS 16 1,95 68, 93 11,43 
 
  Da bi se odredio mehanički integritet uzorka, u kojima se dobija 
CsAlSi5O12, merena je kompresiona čvrstoća. Prosečna vrednost kompresione 
čvrstoće je predstavljena u tabeli 14. Moţe se videti da je čvrstoća  uzorka PLS-
CAS za oko deset puta veća nego od uzorka TP-CAS. Na osnovu ovog rezultata 
moţe se zaključiti da kod Cs-klinoptilolita spoljašnji pritisak ubrzava samo 
faznu transformaciju u drugu stabilnu kristalnu CAS fazu ali ne utiče na 
sinterovanje uzorka, odnosno ne poboljšava gustinu. Imajući u vidu da teorijska 
gustina CsAlSi5O12 jedinjenja iznosi 2,829 (g cm
-3
) [11], moţe se izračunati da 
relativna gustina od PLS-CAS iznosi 87,3% od teorijske dok gustina TP-CAS je 
samo 68,9% od teorijske.  
 
  TakoĎe je vaţno istaći razliku izmeĎu veličine i oblika pora. Na slici 44. 
se mogu videti pore u uzorcima PLS-CAS i TP-CAS. Kod uzorka PLS-CAS pore 
su uglavnom izolovane jedne od drugih sa prečnikom oko 5 mikrona. Sa druge 
strane, TP-CAS uzorak je veoma porozan. Pore su male i veoma često povezane 
stvarajući izduţene pore koje mogu biti duge i do 20 mikrona. Moţe se 
pretpostaviti da su ove izduţene pore odgovorne za slabu kompresionu čvrstoću 





Slika 44. Posmatranje pora uzorka: a) PLS-CAS b) TP-CAS. 
  Na skanirajućoj elekronskoj mikrografiji Cs-CLI (Slika 45.) se ne uočava 
uniformna čestična morfologija. Kao što se moţe videti, Cs-CLI se sastoji od 
aglomerata koji mogu biti i veći od 20 µm u prečniku. Ovi aglomerati su 
sastavljeni od čestica dijametra manjih od 2 µm.  
 
 
                                      Slika 45. SEM mikrograf Cs-CLI. 




  Mikrografije površine preloma peleta sinterovanih uzoraka PLS -CAS i 
TP-CAS su predstavljene na slici 46. Površine preloma su tipične za krte 
materijale. Primećena su oba načina preloma i transgranularni i intergranularni. 
U oba slučaja kompakcija praha dovodi do zbliţnjavanja čestica i ubrzavanja 




Slika 46. Površina preloma uzorka dobijenog: a) sinterovanjem bez primene 
pritiska (PLS-CAS) i b) toplim presovanjem (TP-CAS). 
  
  Sa mikrografa TP-CAS uzorka se moţe primetiti da se isti sastoji od 
delimično sjedinjenih aglomerata nepravilnog oblika koji su veličine od nekoliko 
mikrona, kao i velikih blokova, što znači da u ovom slučaju sinterovanje sa 
primenom pritiska nije dovelo do stvaranja čvrstih aglomerata. Ovo je očekivano 
imajući u vidu krhkost uzorka toplo presovanog na 900  °C tj. razlici u čvrstoći i 
gustini oba uzorka, ali različito od prethodnog slučaja.  
  Sa mikrografa izlomljenog PLS-CAS uzorka moţe se videti da su se aglomerati 




preloma se odlikuje veoma oštrim ivicama. Moţe se videti da kompakcija praha, 
u ovom slučaju, tokom termičke obrade na 1150 °C, obezbeĎuje bolji kontakt 
izmeĎu čestica pri čemu se odvija sinterovanje koje rezultuje u formiranju 
veoma čvrstih aglomerata. Kod toplog presovanja uzorka Cs-CLI ne dolazi do 
stvaranja čvrstih aglomerata stoga moţemo  zaključiti da pritisak u ovom slučaju 
ne utiče pozitivno na proces sinterovanja odnosno ne obezbeĎuje brţi transport 
mase tokom ţarenja. Ova pojava se moţe objasniti činjenicom da je Cs-CLI 
vema hidratisan zeolit i da 25% njegove mase čini adsorbovana voda (Slika 28.). 
Tokom zagrevanja, uz simultanu primenu pritiska voda brţe izlazi iz sistema, 
razbija kontaktne površine što dovodi do razbijanja zrna.  
 
Heterogenost uzoraka  
 
  Na mikrografijama uzoraka PLS-CAS i TP-CAS, snimljenih povratno 
rasutim elektronima, jasno se uočava hetrogenost u sastavu (Slika 47.). 
Heterogenost uzoraka se moţe pripisati Cs-obogaćenim i K, Ca-obogaćenim 
domenima CAS faze. 
  Značajna razlika u gustini elektrona izmeĎu K, Ca i Cs rezultuje 
uočljivim razlikama na mikrografijama nastalim od signala povratno rasutih 
elektrona uzoraka, direktno ukazujući na varijacije u koncentraciji Cs u 
posmatranom regionu. Najsvetlija faza predstavlja potpuno čistu CAS fazu 
(CsAlSi5O12) koji od katjona sadrţi samo Cs. Nešto tamnija faza je CAS faza sa 
nešto niţom koncentracijom Cs jona i sa prisustvom drugih katjona Ca, K. 
Konačno, najtamnija faza je u ovom slučaju isto CAS faza ali sa znatno niţom 
koncentracijom Cs, odnosno, moţe se nazvati Ca, K – obogaćena CAS faza. 





























Al Si K Ca Cs 
     a)       
1 47,69 0,32 35,85   1,03 
2 38,69 4,96 19,95 0,46 0,64 11,22 
3 40,32 6,10 19,40 0,63 1,23 6,86 
4 38,69 5,25 19,56 0,43 0,71 10,36 
5 37,10 3,65 19,66 0,28  16,51 
6 37,22 3,47 19,91 0,34  16,56 
7 36,95 3,51 20,39 0,30  16,84 
8 37,57 3,76 20,53 0,29  16,03 
9 36,11 6,93 17,08 0,84 1,69 15,74 
10 35,53 6,02 18,25 0,84 0,56 21,68 
11 33,77 5,03 16,96 0,96  21,09 
12 35,16 5,27 17,96 0,86 1,47 21,70 
b)       
1 44,32 5,31 26,77 0,94 0,77 9,41 
2 43,45 5,25 26,50 1,14 0,55 10,03 
3 44,35 5,38 26,81 1,00 0,63 9,96 
4 43,74 5,22 26,15 1,11 0,61 9,99 
5 39,73 4,59 23,11 0,47   
6 40,20 3,50 16,67 0,28  13,27 
7 42,49 5,30 25,97 0,93 0,48 12,82 
8 41,34 4,95 24,51 0,56 0,34  
9 37,70 4,28 22,47 0,35 1,54 20,03 
10 31,43 3,84 19,85 0,39 1,25 19,69 
 
4.4.1. Test luženja PLS-CAS-a i TP-CAS-a 
  Luţenje Cs iz PLS-CAS i TP-CAS uzoraka u dejonizovanoj vodi na 90 °C je 
predstavljeno na slici 48. Oba uzorka pokazuju varijacije normalizovanih brzina 
otpuštanja i pH vrednosti tečne faze u kojoj je otpušten cezijum (ličat-luţina) sa 
vremenom luţenja. Normalizovani gubici mase Cs, za PLS-CAS i TP-CAS, prate sličan 
trend sa vremenom: nakon 1 dana luţenja Cs, vrednost normalizovanog gubitka mase 
kod TP-CAS uzorka, na 90 °C, (1,818 g/m





brzine otpuštanja PLS-CAS (1,022 g/m2). Nakon 28 dana vrednosti dostiţu do 
15,1872 g/m
2
 i 7,532 g/m
2
, respektivno. Konstanta brzine luţenja Cs za TP-CAS 
iznosi 0,4956 (g/m
2
)/dan dok ista za PLS-CAS iznosi 0,2414 (g/m
2
)/dan. pH 
vrednosti postepeno rastu sa vremenom luţenja i doseţu vrednost od 6,9 za PLS-
CAS a 7,2 za TP-CAS nakon 28 dana luţenja. Ovo se moţe pripisati reakciji 
jonske izmene izmeĎu cezijuma u oba čvrsta uzorka i vodonikovog jona u 
rastvoru. Stoga, termalni tretman Cs-CLI povećava njegov kapacitet zadrţavanja 
tako što vezuje ove jone unutar rezultujuće kristalne strukture . 
  Na osnovu ovih rezultata moţe se pretpostaviti da otpušteni Cs joni mogu 
originalno da potiču od istih koji se nalaze u površinskim slojevima kristalne 
strukture CAS faze. Tako da niţa vrednost brzine luţenja Cs iz PLS-CAS je 
posledica njegove veće gustine i niţe otvorene poroznosti u poreĎenju sa TP-
CAS. Na ovaj način, difuzija Cs jona je u velikoj meri sprečena.  
  Slično kao i kod polucita, veoma je teško precizno uporediti analize 
luţenja CAS materijala dobijenih na različite načine.  Osim toga, literaturnih 
podataka za luţenje cezijuma iz CAS faze ima jako malo. Uslovi luţenja se u 
mnogome razlikuju kao i osobine samog materijala. Ono što se  za sigurnošću 
moţe zaključiti je da su rezultati za polucit, dobijeni u ovoj studiji, znatno bolji 













Slika 48. Statičko jonsko luţenje u dejonizovanoj vodi na 90 °C od TP-CAS i 
PLS-CAS a) promena normalizovanog gubitka mase Cs u odnosu na vreme 

























































 Termalno indukovanim faznim transformacijama Cs izmenjenih zeolita 
tipa LTA i klinoptilolita (CLI) dobijaju se kristalne alumosilikatne strukture 
polucita (CsAlSi2O6) i faze CAS (CsAlSi5O12), visoke termalne stabilnosti i 
otpornnosti na izluţenje jona cezijuma, čime je pokazano da sintetisani i ispitani 
materijali mogu biti matrice za imobilizaciju jona cezijuma. 
Pokazano je da jonska izmena u zeolitima tipa LTA i klinoptilolita koji 
sadrţe mešovit sastav katjona efikasna, Cs je zamenio 37% jona u zeolitu tipa LTA 
i 81 % jona u klinoptilolitu. Stepen kristaliničnosti LTA zeolita se znatno smanjuje 
nakon jonske izmene, dok u slučaju klinoptilolita nije došlo do većih strukturnih 
promena, što je pripisano razlici u broju izmenjivih katjona u njihovim strukturama 
i velikom jonskom radijusu cezijumovog jona.  
UtvrĎeno je da se mehanizam termalnih transformacija Na/Cs-LTA i Cs-
CLI odvija kroz tri procesa: dehidrataciju, amorfizaciju i rekristalizaciju u kojoj se 
formirajustabilnije kristalne faze. Proces dehidratacije Cs-CLI je dvostepen 
niskotemperaturski (25 - 500 °C) u kome je gubitak vode 13% i 
visokotemperaturski (700- 1000 °C) koji je praćen značajnim gubitkom vode od 
12%, što do sada nije zabeleţeno u literaturi.  
  Zeolit Na/Cs-LTA na 1000 °C rekristalistališe i nastaje mešavina dve faze: 
polucita (CsAlSi2O6) i sekundarne faze nefelina koja je Na-aluminosilikat 
(Na2AlSiO4). UtvrĎeno je da je ova strukturna mešavina stabilna do 1400 °C, što 
nije ranije bilo poznato, a od značaja je za potencijalnu primenu ovih materijala.  
U slučaju Cs-CLI, do rekristalizacije i stvaranja Cs-aluminosilikatne faze-CAS 
(CsAlSi5O12) dolazi na 1150 °C, pri čemu je ova faza stabilna do 1300 °C, a na 
1400 °C se topi. 
  Po prvi put je u ispitivanju termalno indukovanih transformacija zeolita 
primenjen postupak toplog presovanja. UtvrĎeno je da se temperature formiranja 
cezijumskih alumosilikata sniţavaju za 250 °C. Polucit (CsAlSi2O6) se formira na 
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750 °C a faza CAS (CsAlSi5O12) na 950 °C. Dobijeni rezultati su interpretirani 
primenom Klauzijus-Klapejronove jednačine.  
 Ispitivanja osobina uzoraka dobijenih toplim presovanjem su takoĎe po prvi 
put pokazala da TP-polucit ima dobre mehaničke osobine: kompresionu čvrstoću 
od 50MPa visoku relativnu gustinu 94,9% i izolovane pore prosečanog prečnika 
od oko 5 mikrona, što je od značaja za potencijalnu primenu. Uzorak TP-CAS 
ima nisku kompresionu čvrstoću, relativnu gustinu 68,9% i visoku poroznost, što 
je je posledica sprečene visoko temperaturske dehidratacije (700-1000 °C) 
praćene značajnim gubitkom vode (12%). Da gubitak vode  u 
visokotemperaturskoj dehidrataciji ima presudan uticaj potvrĎuju bolje 
mehaničke osobine i niţa poroznost CAS faze dobijene sinterovanjem bez 
primene pritiska. 
Ispitani proces luţenja iz kompaktnih formi pokazuje da su brzine 
izluţenja jona cezijuma, tokom 28 dana, iz polucita (CsAlSi2O6): TP-polucit 
(2,602 g/m
2
) i  PLS-polucit (3,735 g/m
2
) znatno niţe od brzina kojom Cs jon 
napušta CAS - (CsAlSi5O12) fazu: TP-CAS (15,1872 g /m
2




Poznato je da se nakon stabilizacije/solidifikacije, radioktivni otpad 
uobičajeno smešta (odlaţe) u dubokim geološkim formacijama (granitne stene, 
napušteni rudnici) da bi se permanento izolovali iz biosfere. Tako da 
solidifikovani blokovi moraju da poseduju minimum čvrstoće potrebne za lako 
rukovanje. Osim toga, potrebno je i da isti poseduju i nizak stepen luţenja 
cezijuma u spoljašnju sredinu. Rezultati ispitivanja prikazanih u ovom radu 
pokazuju da, polucitna matrica (CsAlSi2O6) dobijena toplom presom, sa 
stanovišta odlaganja Cs materijala ima osobine koje materijali za ovu namenu 
moraju imati: visoku termalnu stabilnost, dobru mehaničku čvrstoću, nisku 
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